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Sazˇetak
Pristupilo se pretrazˇivanju internet baze Web of Science [1] u verziji 5.28 za po-
limere: CN (celulozni nitrat), CR-39 ili PADC (polialil diglikol karbonat), PC (poli-
karbonat), PE (polietilen), PEEK (polietilen eter keton), PET (polietilen tereftalat),
PI (poliimid), PMMA (polimetil metakrilat), PP (polipropilen), PS (polistiren), PTFE
(politetrafloroetilen), PVC (polivinil klorid) i PVDF (polivinilden florid). Trazˇio se
podatak o dimenzijama latentnih ionskih tragova iniciranih zracˇenjem brzih tesˇkih
iona. Za sve polimere osim PEEK i PVC pronasˇli su se eksperimentalni podaci, a za
CN nije pronaden dovoljan broj podataka za analizu. Tragovi u trazˇenim polimerima
proucˇavali su se razlicˇitim eksperimentalnim tehnikama medu kojima su najvazˇnije
: FTIR (infracrvena spektroskopija), Ramanova spektroskopija, XRD (rasprsˇenje X
zraka), SANS (rasprsˇenje neutrona pod malim kutem), SAXS (rasprsˇenje X zraka
pod malim kutem), UV-vidljiva (ultraljubicˇasta) spektoskopija, proucˇavanje vodlji-
vosti (konduktometrija), TEM (transmisijska elektronska mikroskopija), SEM (skeni-
rajuc´a elektronska mikroskopija), SFM/AFM (skenirajuc´a mikroskopija sila/atomska
mikroskopija sila) uz brojne druge koriˇstene tehnike.
Model koji se koristio za interpretaciju eksperimentalnih podataka o ionskim tra-
govima u polimerima jest analiticˇki model termalnog vala (analytical thermal spike
model, ATSM) [2]. Model se pokazao univerzalan i primijenjiv u najˇsirem spek-
tru materijala kako izolatorskih tako i poluvodicˇkih te je dokazao svoju ispravnost i
unutar opsega ovog rada. Usproks odstupanjima, dobiveni podaci slijede trendove
predvidene modelom. Glavni trend je povec´anje kvadrata radijusa ionskog traga o
linearnoj elektronskoj zaustavnog moc´i iona. Razlicˇite eksperimentalne tehnike su
rezultirale razlicˇitim prosjecˇnim velicˇinama tragova pa je dana okvirna procjena utje-
caja eksperimentalne tehnike.
Redovita pojava kod analiziranih podataka jest da su se ioni cˇesto ponasˇali kao
brzi neovisno u kojem su rezˇimu brzine pa se sugerira da bi mozˇda bilo bolje odabrati
< 0.5 MeV/n za spore ione (umjesto dosadasˇnjih 2.2 MeV/n) te > 1 MeV/n za brze
(umjesto dosadasˇnjih 7.6 MeV/n) [2]. Dodatan fenomen koji je istrazˇen unutar ok-
vira rada jest ovisnost velicˇine traga o nabojnom stanju projektila iona za povrsˇinske
slojeve (do 100 nm u dubinu) u PET-u, a narocˇito za PI. Tu je utvrdeno da postoji
vrlo jaka sveza izmedu povec´anja velicˇine traga i viˇsekratnika nabojnog stanja. Ta
veza ima ovisnost kao ∼ nabojm gdje je m odreden na 1.25 za PP te 0.741 za PET.
Na vec´im dubinama materijala (1-1.5 mm) ovaj efekt nestaje. [58]
Kljucˇne rijecˇi: ionski trag, brzi tesˇki ion, polimer, model termalnog vala
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Swift heavy ion tracks in polymers
Abstract
We accessed the Web of Science [1] web site in version 5.28 in search for the
following polymers: CN (nitrocellulose), CR-39 (allyl diglycol carbonate) or PADC
(polyallyl diglycol carbonate), PC (polycarbonate), PE (polyethylene), PEEK (polyet-
her ether ketone), PET (polyethylene terephthalate), PI (polyimide), PMMA (polymet-
hyl methacrylate), PP (polypropylene), PS (polystyrene), PTFE (polytetrafluoroet-
hylene), PVC (polyvinyl chloride) and PVDF (polyvinylidene fluoride). We sought
information about the dimensions of latent ion tracks initiated by radiation of fast
heavy ions. For all polymers other than PEEK and PVC, we found at least some expe-
rimental data. For CN, insufficient data for the analysis was found. The traces in
the required polymers were studied by a variety of experimental techniques, such
as FTIR (Fourier transform infrared spectroscopy), Raman spectroscopy, XRD (X-ray
diffraction), SANS (small-angle neutron scattering), SAXS (small-angle X-ray scatte-
ring), UV-Vis (ultraviolet-visible) spectroscopy, conductivity study, TEM (transmission
electron microscopy), SEM (scanning electron microscopy), SFM/AFM (atomic force
microscopy/scanning force microscopy) and many other techniques.
The model used to interpret experimental ion track data in polymers is an analyti-
cal thermal spike model (ATSM) [2]. The model has proved universal and applicable
in the widest range of insulating and semiconducting materials, and has proven its
validity within the scope of this thesis. Despite deviations from the model, the data
obtained follow the trend given by the model. The main trend is the increase of the
ionic radius quadrature with linear electronic stopping power of the ion. Various
experimental techniques have resulted in different average track sizes, so a rough
estimate of the effect on the experimental technique is given.
The usual occurrence in the analyzed data is that the ions often acted as fast
independent in which the speed regime the were, so it is suggested and it may be
better to choose <0.5 MeV / n for the slow ions (instead of the current 2.2 MeV / n)
and > 1 MeV / n for fast ions (instead of the current 7.6 MeV / n) [2]. An additional
phenomenon explored within the framework of this work is the dependence of the
track size on the charge state of the ion projectile for the surface layers (up to 100
nm in depth) in PET and, in particular, for PI. It has been established that there is a
very strong link between the increasing track size and multiple of the charge state.
This link has a relation like ∼ chargem where m is specified at 1.25 for PP and 0.741
for PET. This effect disappears for higher depths in material (1-1.5 mm). [58]
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U ovom radu tezˇiˇste c´e se dati na odredivanju i konkretnim vrijednostima dimen-
zija latentnih tragova u nekim od vazˇnijih polimera. Kako su se zapravo proucˇavali
vec´ dostupni podaci unutar internet baze znanstvenih radova ,,Web of Science” [1]
bilo je vrlo vazˇno ispravno zadati okvire ovog poprilicˇno opsezˇnog zadatka. Kljucˇno
je bilo dobiti podatke o iznosu latentnih tragova, promatranih najˇsirim spektrom teh-
nika, od kojih neke proucˇavaju viˇse kemijske, druge strukturne promijene unutar
materijala. Bilo je pozˇeljno da tu promijenu uzrokuju brzi tesˇki ioni, ali se zbog ana-
lize u mjerenja ukljucˇilo i nesˇto laksˇe i sporije ione. Iako nije moguc´a njihovo strogo
definiranje, obicˇno se uzimaju ioni koji sadrzˇe viˇse od dvadeset nukleona po jezgri
i energije vec´e od 1 MeV/nukleonu [2]. Takav ion, prema modelu termalnog vala,
po ulasku u materijal prvenstveno gubi energiju sudarima s elektronima materijala,
dok su sudari s atomskim jezgrama rijetki pa se zanemaruju. Rezultat prolaska je
cilindricˇni trag dimenzije reda desetak nanometara i duljine desetak mikrona. Ener-
gija koju ion po prolasku gubi zove se elektronska zaustavna moc´ dE/dx i izrazˇava
se najcˇesˇc´e u keV/nm. Kod klasicˇno definiranog praga za nastanak ionskog traga
treba se nadmasˇiti odredeni prag zaustavne moc´i iona koji onda rezultira taljenjem
materijala. Kako su polimeri materijali osjetljivi na zracˇenje s neprecizno definiranim
taliˇstem cˇesto c´e pokazivati odudaranja od teorijskih predvidanja za dimenziju traga.
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2 Teorijski dio
2.1 Zaustavljanje iona u materijalu
Opc´enito, imamo dvije temeljne posljedice koji dokazuju prvotni prolazak nabi-
jene cˇestice kroz tvar. To su gubitak energije cˇestice i odmak cˇestice od prvobitnog
smjera prolaska. Dva temeljna uzroka tih pojava (mehanizmi nastanka) su nee-
lasticˇni sudari sa atomskim elektronima i elasticˇna rasprsˇenja na jezgrama. Ti pro-
cesi se dogadaju puno puta tokom prolaska cˇestice pa vidimo samo ukupni rezul-
tat svih interakcija (transferi energije po interakciji su mali, ali imamo veliki broj
istih). Dodatni procesi koji se dogadaju, ako su za to ostvareni uvjeti, ukljucˇuju
emisiju Cherenkovljevog zracˇenja, nuklearne reakcije i emisiju zakocˇnog zracˇenja
(bremsstrahlung), no navedeni procesi su na energijama reda 10-ak MeV iznimno
rijetki u odnosu na dva prethodna (za cˇestice tezˇe od elektrona). Nabijene cˇestice
dijelimo na elektrone i pozitrone kao lake nabijene cˇestice te tesˇke nabijene cˇestice
(tezˇe od elektrona, ukljucˇuje pione, protone, α-cˇestice i ostale lake jezgre, a za tezˇe
ione imamo dodatne efekte koje ovdje u ovom pojednostavljenom modelu ne anal-
iziramo).
Neelasticˇna rasprsˇenja iona na elektronima materijala gotovo u potpunosti uzrokuju
gubitak energije tesˇke cˇestice, a elasticˇna rasprsˇenja na jezgrama, cˇak i kad su mase
projektila i mete sumjerljive, vrlo malo, iako se dovoljno cˇesto zbivaju (dosta rjedi su
sudari u kojima se ion skrec´e za veliki kut, a relativno cˇesˇc´i su sudari pri kojima se
projektil otklanja manje jer je prosˇao dalje od atoma, no oba su rjedi nego na atom-
skim elektronima). Neelasticˇna rasprsˇenja su statisticˇki procesi odredene vjerojat-
nosti (klasicˇne vjerojatnosti kod Coulombovog elasticˇnog rasprsˇenja ili kvantne vjero-
jatnosti kod ne-Rutherfordovog ukoliko dode do nuklearnih reakcija) sa vrlo malom
fluktuacijom vrijednosti (velika gustoc´a dogadaja), pa mozˇemo racˇunati sa srednjom
vrijednosˇc´u gubitka energije na putu cˇestice. Tu velicˇinu zovemo zaustavna moc´ i
oznacˇavamo dE/dx. Nju mozˇemo dobiti klasicˇnim razmatranjem (Bohrov pristup) i
uzimajuc´i u obzir kvantno-mehanicˇke efekte (Bethe-Bloch).
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2.1.1 Klasicˇni izvod zaustavne moc´i
Zamislimo nabijenu cˇesticu naboja Ze, mase M i brzine v koja prolazi kroz mater-
ijal. Imamo atomski elektron u materijalu na udaljenosti b od putanje cˇestice (Slika
2.1). Pretpostavljamo da je elektron slobodan i pocˇetno miruje, a da se tokom in-
terakcije s tesˇkom nabijenom cˇesticom vrlo malo pomakne pa interakciju mozˇemo
gledati na njegovom pocˇetnom polozˇaju. Za projektil uzimamo da se ne odmicˇe od
pocˇetnog smjera posˇto je M  me.
Slika 2.1: Interakcija tesˇke nabijene cˇestice sa atomskim elektronom.

















gdje zbog simetrije samo komponenta okomita na smjer gibanja doprinosi. Prim-





















Ako sad imamo Ne za gustoc´u elektrona tada je gubitak energije svih elektron na
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udaljenosti b dob+ db za dubinu uzorka dx:







gdje je dV = 2pibdbdx. Kako se sudari na velikim udaljenostima ne dogadaju unutar
malog vremena i kako za udaljenosti b = 0 imamo beskonacˇan prijenos energije,










Maksimalni transfer energije imamo za cˇeoni sudar kada elektron dobije energiju
me(2v)








Za gornju granicu bmax znamo da elektroni nisu slobodni nego vezani s atomima
s nekom orbitalnom frekvencijom ν. Kako bi elektron dobio energiju perturbacija
prolazne cˇestice mora biti mala uodnosu na period vezanog elektrona τ = 1/ν inacˇe
imamo adiabatsku vezu i nema prijenosa energije (adijabatska invarijanta). Vrijeme




≤ τ = 1
ν¯
, (2.8)
















Ova formula predstavlja dovoljno dobar prikaz gubitka energije za vrlo tesˇke cˇestice




Kako bi mogli posve tocˇno odrediti gubitak nabijene cˇestice u materijalu potrebno
se referirati na Bethe-Blochovu formulu koja ukljucˇuje kvantne efekte. Za razliku od
klasicˇnog slucˇaja gdje se izmjena energije parametrizirala preko udarnog parametra
(2.3) sada c´e se koristiti parametrizacija preko izmjene impulsa. Kako je moment






















Ovo je osnovna formula zvana Bethe-Bloch formula od koje se krec´e pri izracˇunima
gubitka energije cˇestice no vec´inom dodajemo density effect korekciju δ i shell korek-























2 = 0.1535MeV cm2/g, re - klasicˇni elektronski radijus = 2.817×10−13 cm,
me - masa elektrona, Na - Avogadrov broj = 6.022×1023mol−1, I - srednji eksitacijski
potencijal, Z - atomski broj mete, A - relativna atomska masa mete, ρ - gustoc´a mete,
z - naboj ulazne cˇestice izrazˇen u e, β - v/c ulazne cˇestice, γ - 1/
√
1− β2, δ - density
effect korekcija, C - shell korekcija, Wmax - maksimalni prijenos energije u jednom






1 + η2 + s2
, (2.13)
gdje je s - me/M i η = βγ. U slucˇaju da je M  me tada je Wmax ' 2mec2η2.
Glavni parametar Bethe-Blochove formule je srednji ionizacijski potencijal - I, koji
je zapravo srednja orbitalna frekvencija ν¯ iz Bohrove klasicˇne formule (2.8) puna
Plankova konstanta h. To je logaritamski tezˇinski usrednjen ν preko atomskih nivoa
sa oscilatornim jakostima. Oscilatorne jakosti su nepoznate za vec´inu materijala pa
imamo umjesto toga koristimo poluempirijsku formulu za I u ovisnosti o Z dobivenu
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eV Z < 13 (2.14)
I
Z
= 9.76 + 58.8Z−1.19eV Z > 13, (2.15)
sˇto je pojednostavljeni prikaz koji ne vrijedi u djelovima gdje se zatvaraju atom-
ske ljuske. Shell i Density korekcija δ i C vazˇne su na niskim i visokim energijama.
Density korekcija potjecˇe od toga sˇto cˇestica prolaskom polarizira materijal svojim
lokalnim elektricˇnim poljem pa su tako elektroni daleko od putanje cˇestice zasjenjeni.
(ne “vide” cijelo polje). Tako c´emo imati manji doprinos od tih udaljenih elektrona
(manje sudara s njima). Ucˇinak c´e biti izrazˇeniji sˇto je vec´a energija ulazne cˇestice sˇto
vidimo iz klasicˇnog izraza (2.9) za bmax maksimalni udarni parametar. Kako brzina
cˇestice raste tako je i cilindar integracije vec´i pa imamo vec´i udio tih udaljenih elek-
trona u doprinosu ukupnom gubitku energije. Kako mu i sam naziv kazˇe kod vec´e
gustoc´e materijala imat c´emo vec´u polarizaciju pa c´e ucˇinak biti izrazˇeniji kod kon-
denziranih tvari nego kod fluida. Usporedba Bethe-Bloch formule sa i bez korekcije
dana je na slici 2.2.
Vrijednosti δ dane su izracˇunima Sternheimera:
δ =

0 X < X0
4.6052X + C0 + a(X1 −X)m X0 < X < X1
4.6052X + C0 X > X1,
(2.16)


















Slika 2.2: Ucˇinak korekcija na Bethe-Bloch formulu dan za slucˇaj miona u bakru.
Prema [3]
gdje jeNe(gustoc´a elektrona) =NaρZ/A. Ostale velicˇine se dobivaju prilagodavanjem
na eksperimentalne podatke. Shell korekcija zamjenjuje viˇse efekata koji nastaju kad
je brzina ulazne cˇestice usporediva ili manja od orbitalne brzine vezanog elektrona.
Sada viˇse ne mozˇemo koristiti pretpostavku da elektron miruje u odnosu na upadnu
cˇesticu pa je potrebno uzeti u obzir korekciju:
C(I, η) = (0.422377 η−2 + 0.0304043 η−4 − 0.00038106 η−6)×10−6 I2
+ (3.850190 η−2 − 0.1667989 η−4 + 0.00157955 η−6)×10−9 I3, (2.19)
gdje je η = βγ, a I - srednji ekscitacijski potencijal u eV.
Od ostalih korekcija u Bethe-Bloch formuli imamo radijacijske efekte na ultra-
relaticisticˇkim brzinama, kinematicˇke efekte zbog pretpostavke beskonacˇne mase
ulazne cˇestice, QED procesi viˇseg reda, cˇlanovi viˇseg reda u udarnom presjeku rasprsˇenja,
korekcije interne strukture cˇestice, korekcije spina i uhvat elektrona na vrlo malim
brzinama. Uz iznimku uhvata elektrona kod tesˇkih iona ovi ostali doprinosi su zane-
marivi do na korekciju od ' 1 %. Za cˇestice poput elektrona (“elementarne” cˇestice)
Bethe-Bloch formula sa Shell i Density korekcijom daje viˇse nego pouzdane rezultate.
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2.1.3 Energijska ovisnost
Primjer energijske ovisnosti dE/dx dana je na slici 2.3 na kojoj vidimo primjer
ovisnosti Bethe-Bloch formule o kineticˇkoj energiji.
Slika 2.3: Energijska ovisnost elektronske zaustavne moc´i o energiji za ion Xe u
SiO2. Iscrtkano je oznacˇena nuklearna zaustavna moc´. Ukupna se zaustavna moc´
(nerelativisticˇka) dobiva zbrajanjem dvije navedene.
Za vrlo male nerelativisticˇke energije imamo poluempirijske modele Lindhard-
Scharff i Anderson-Ziegler kao sˇto je vec´ videno na slici 2.2. Za vec´e nerelativisticˇke
energije ovisnost ide kao 1/β2, pada s porastom brzine te ima minimum za v ' 0.96 c.
U toj tocˇki imamo minimalnu moc´ ionizacije i ta vrijednost je priblizˇno jednaka za sve
cˇestice istog naboja. Za vec´e energije cˇlan 1/β2 postaje priblizˇno konstantan i dE/dx
raste zbog logaritamske ovisnosti u formuli (2.12) da bi se rast naposlijetku dokinuo
zbog density korekcije (nije vidljivo na slici 2.3 jer je izvan energijskog spektra, vidi
se na slici 2.2 kao crvena iscrtkana linija). Za energije ispod minimuma ionizacije
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imamo krivulje koje su specificˇne za svaku cˇesticu ponaosob te se uz pomoc´ njih
mozˇe detektirati tip cˇestice. Za vrlo visoke i niske energije Bethe-Bloch formula viˇse
ne vrijedi (Bethe dio, Slika 2.2). Za vrlo visoke energije imamo radiacijske efekte,
a na niskim uhvate elektrona koji smanjuju efektivni naboj cˇestice (slozˇen problem,
pogotovo za tesˇke ione, vodi na vec´ navedene poluempirijske modele). Kao sˇto smo
vec´ vidjeli na slici 2.3. gubitak energije cˇestice je nejednolik te c´emo imati vec´u
depoziciju energije pri kraju putanje dok c´e na samom kraju putanje cˇestica pocˇeti
prikupljati elektrone pa c´e doprinos pasti (Slika 2.4).
Slika 2.4: Braggova krivulja ovisnosti kolicˇine ionizacije o dubini u materijalu (cˇestica
dolazi s desna). Na krivulji je uocˇljiv Braggov vrh za koji cˇestica ostvaruje najvec´u
ionizaciju u materijalu, konkretno ovdje za Xe u SiO2. Iscrtkano je oznacˇena nuk-
learna zaustavna moc´. Ukupna se zaustavna moc´ (nerelativisticˇka) dobiva zbrajan-
jem dvije navedene.
2.1.4 Ogranicˇenja Bethe-Bloch formule
U formi (2.12) Bethe-Bloch formula zadovoljava vec´inu racˇuna koji ukljucˇuji el-
ementarne cˇestice, α- cˇestice i laksˇe jezgre te daje rezultate tocˇne do na nekoliko
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posto za relativisticˇke brzine pa sve do β ' 0.1. Za tezˇe jezgre do Z ' 56 potrebno
je josˇ ukljucˇiti korekciju efektivnog naboja spomenutu ranije. Za podrucˇje brzina
0.01 < β < 0.05 nema opc´enito zadovoljavajuc´e teorije koja opisuje gubitak energije
cˇestice iako postoje empirijske formule (Slika 2.2, Anderson-Ziegler). Za brzine is-
pod β ' 0.01 imamo razvijenu teoriju (Slika 2.2, Lindhard-Scharff). Svakako na-
jvazˇnija iznimka za upotrebu Bethe-Bloch formule je slucˇaj kanaliranja cˇestice u
kristalinicˇnom materijalu. Ukoliko je kut upadne cˇestice manji od nekog kriticˇnog
(obzirom na okomicu povrsˇine mete) ona c´e se gibati polako oscilirajuc´i izmedu
atomskih nivoa i tako zadrzˇati smjer kretanja na relativno velikim udaljenostima
(ukoliko ne naide na defekte ili se rasprsˇi na povsˇini mete). Valna duljina putanje
opc´enito sadrzˇi viˇse duljina resˇetke. Sve skupa rezultira da cˇestica naide na manje
elektrona nego sˇto bi to bio slucˇaj u amorfnoj tvari (pretpostavka Bethe-Bloch for-
mule) pa je njen gubitak energije po putu znatno smanjen. U konkretnom eksperi-
mentu bit c´e vrlo vazˇno poznavati konkretnu kristalnu os koju usmjeravamo prema
snopu kako bi postigli ili izbjegli kanaliranje. Opc´enito, kut za kanaliranje je mali








gdje je a0- Bohrov radijus i d - razmak izmedu slojeva atoma. Za φ > φc nemamo
kanaliranje i materijal mozˇemo tretirati kao amorfni.
2.1.5 Doseg
Doseg se odreduje eksperimentalno, propusˇtanjem snopa odredene energije kroz
odredeni materijal razlicˇitih debljina i mjerenjem omjera transmitiranih i ulaznih
cˇestica. Tipicˇna situacija prikazana je na slici 2.5.
Kao sˇto vidimo na slici 2.5 kako povecˇavamo debljinu materijala transmisija nec´e
odmah pasti na nulu kao sˇto ocˇekujemo za neku dobro definiranu velicˇinu vec´ pos-
toji neka raspodjela. Razlog tome je sˇto gubitak energije nije kontinuirana funkcija
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Slika 2.5: Graf ovisnosti transmisije cˇestica o debljini materijala. Doseg mozˇemo
aproksimirati gausijanom (statisticˇki proces). [4]
vec´ statisticˇan proces (dvije identicˇne cˇestice nec´e, u prosjeku, dozˇivjeti jednak broj
sudara pa c´e im i gubitak energije biti razlicˇit). Zato c´e se govoriti o ansamblu
identicˇnih cˇestica i njihovoj raspodjeli oko neke srednje vrijednosti sa pripadnim
rasapom. Ova pojava se naziva straggling dosega. U prvoj aproksimaciji, doseg
mozˇemo aproksimirati gausijanom sa srednjom vrijednosˇc´u na pola nagiba stepenice
grafa (Slika 2.5) sˇto c´e biti vrijednost debljine na kojoj je pola cˇestica zaustavljeno.
Za primjenu, naravno, bitna je udaljenost na kojoj su gotovo sve (ili sve) cˇestice ap-
sorbirane. Nju dobivamo uzimanjem tangente na polovici visine stepenice grafa i
ekstrapoliranjem na x os. Tu vrijednost nazivamo ekstrapolirani ili prakticˇni doseg.
2.2 Iradijacijska tehnologija
Za proizvodnju nuklearnih tragova potrebno je koristiti izvor tesˇkih iona dovoljno
velikog nuklearnog naboja i energije. U principu, mozˇemo koristiti cˇetiri razlicˇita
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nacˇina za dobivanje ionskih tragova u krutinama: nuklearni reaktori, radioaktivni
izvori, ionski ubrzivacˇi i skenirajuc´e ionske mikro-zrake.
Slika 2.6: Iradijacijske tehnike za dobivanje ionskih tragova: (a) fisijski fragmenti.
(b) alfa cˇestice ili fisijski fragmenti. (c) ionski snop (,,broad-beam”). (d) ionski
mikrosnop (,,fine-beam”). [5]
Iradijacija krutine karakterizirana je sljedec´im parametrima projektila, fizikalnim
jedinicama i tipicˇnim parametrima dosega (Tablica 1.1).
nuklearni naboj Z 1 ≤ Z ≤ 92
kineticˇka energija iona T (MeV) 100 ≤ T ≤ 104
specificˇna energija iona Ts (MeV/ u) 10−2 ≤ Ts ≤ 102
upadni kut iona α (°) 0° ≤ α ≤ 90°
kutni rasap ionske zrake ∆α (°) 0° ≤ ∆α ≤ 180°
intenzitet snopa cˇestica I (cˇestice / s) 100 ≤ I ≤ 1014
tok cˇestica F (cˇestice / (cm2s1)) 100 ≤ F ≤ 1015
povrsˇinska doza (,,fluence”) (cˇestice / cm2) 100 ≤ N ≤ 1012
Tablica 2.1: Iradijacijski parametri, jedinice i tipicˇni rasponi vrijednosti za stvaranje
ionskih tragova u krutinama. Prema [5]
Iako se energetski ioni mogu proizvesti na nekoliko nacˇina danas je najcˇesˇc´i pris-
tup preko ionskih implantatora ili ionskih ubrzivacˇa dok se ciklotroni, sinhrociklo-
troni, radioaktivni uzorci i nuklearni reaktori koriste nesˇto rijede. Razlog takve po-
pularnosti je cˇinjenica da je moguc´e proizvesti cˇist snop bilo kojeg iona bilo koje
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energije. Glavna razlika izmedu ta dva uredaja je u dostupnom energijskom rasponu
i snopovskim strujama. Implatatori rade u rasponu energije od 10 do nekoliko 100
keV sa visokim strujama od desetak µA do desetak mA. Ionski ubrzivacˇi rade u MeV
energetskom podrucˇju no sa nizˇim strujama koje idu do nekih 100 µA.
Treba napomenuti da neki visokoenergetski nuklearni ubrzivacˇi mogu postic´i ener-
gije izmedu 0.5 i 5 GeV (npr., vidi Slika 2.7a) no samo rijetki od njih se ujedno koriste
i za ozracˇivanje polimera i njihovo istrazˇivanje. Za to polje istrazˇivanja najvazˇniji je
raspon energije od 1.5 do 5 MeV po nukleonu kako taj raspon sadrzˇi maksimum elek-
tronske zaustavne moc´i projektila odnosno daje najvec´u gustoc´u energije u ionskom
tragu unutar mete (Slika 2.7b). Taj raspon energije je josˇ uvijek ispod granice Co-
ulombove barijere za nuklearne reakcije tako da nuklearne reakcije u meti nisu vje-
rojatne. Maksimalna struja snopa dostupna za neku masu projektila je manje vazˇna
za primjene u polimerima zbog njihove velike osjetljivosti.
Slika 2.7: Primjer visokoenergetskog ubrzivacˇkog sustava namijenjenog za is-
trazˇivanje materijala ISL u Berlinu. a) dostupni energijski raspon kao funkcija mase
projektila za dvije kombinacije ubrzivacˇa. VdG: kombinacija van de Graaff injektora i
ciklotrona, RFQ: kombinacija radiofrekventnog injektora i ciklotrona. b) energija po
masi atoma kao funkcija atomskog broja projektila. Razlicˇite boje oznacˇuju pripadne
treansfere energije po jedinici puta (ovdje za amorfne Si mete). Raspon unutar kojeg
RFA ciklotron radi (oznacˇeno iscrtkanim pravokutnikom) podudara se sa rezˇimon
makimalnog linearnog transfera energije (eng. linear energy transfer - LET) sˇto je
od najvec´e koristi za istrazˇivanja materijala. (preuzeto od: Hahn-Meitner-Institute
Berlin; Ion Beam Laboratory ISL) [6]
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2.2.1 Ionski implantatori
Kao sˇto je i ranije navedeno ionski implantatori su uredaju koji podrzˇavaju struje
visokog intenziteta, izmedu nekoliko stotina µA pa sve do nekoliko stotina mA (ukupne
struje) pri relativno niskim energijama u keV podrucˇju. Sastoje se od a) pozitiv-
nog izvora iona, b) ekstrakcijskog sustava, c) analizirajuc´eg magneta gdje se obavlja
razdvajanje po masi cˇestica, d) ubrzivacˇkog sustava, e) skretnog (eng. switching)
uredaja, f) pomoc´nih snopovskih cijevi s pripadnim komorama za metu (Slika 2.8).
Ionski izvori koji se koriste su ugalvnom dva tipa: a) hot-filament, hollow-cathode
izvori ili b) sputter-ion izvor. Svaki ima svoje prednosti i nedostatke. Hot-filament
izvori su jednostavni za koriˇstenje, ali ne daju bilo kakav, proizvoljan snop zbog tem-
perature pec´i (tipicˇno 1500 °C) za isparavanje krutina. K tome, materijali poput Mo,
W i Hf s niskim tlakom para tesˇko se dobivaju i pri visokim temperaturama. S druge
strane, sputter izvori daju bilo kakav snop i visoke struje, ali su slozˇeni za upravljanje
i skuplji. Ostali ionski izvori kao sˇto je radiofrekventni, Freeman i Bernas rijetko se
nalaze u modernim istrazˇivanjima sa ionskim implantatorima.
Slika 2.8: Ogledna shema udruzˇenog ionskog implantatorskog i ubrzivacˇkog postro-
jenja. Implantator je prikazan u gornjem lijevom kutu i tipa van de Graaff dok je
ubrzivacˇ tandem tipa. [6]
14
Nakon sˇto je proizveden ionski snop i ekstrahiran iz ionskog izvora prolazi kroz
analizirajuc´i magnet koji obavlja ionsku selekciju te se tako formira cˇist snop za ubr-
zivacˇki sustav. Dobar analizatorski sustav mora imati kvalitetu 1/200 odnosno mora
biti sposoban izdvojiti jedan izotop cˇak i ako je masa analizirajuc´eg iona 200 amu
(eng. atomic mass units - atomske jedinice mase). Cˇvrstostanjski izvori snage ops-
krbljuju ubrzivacˇki sustav. Moderni izvori mogu dati napone sve do 500 kV. Cijeli im-
plantator je polariziran snagom izvora dok su pozitivni ioni ubrzavani u ubrzavacˇkoj
cijevi koja spaja analizirajuc´i magnet implantatora sa uzemljenim komorama za mete
(vidi slika 2.8). Skretni sustav koji usmjerava snop prema jednoj od moguc´ih snopov-
skih linija (ocˇekovano, kod jedne snopovske linije nije potreban) mozˇe biti elektros-
tatskog ili magnetskog tipa. Sa implantacijskim sustavom dolazi okomito i vodoravno
skenirajuc´i sustav koji osigurava uniformnu implantaciju na povrsˇinu od tipicˇno 40
cm2. Implantacija i analizirajuc´e komore s metama objasnit c´e se u nastavku.
2.2.2 Elektrostatski ubrzivacˇi
Rad elektrostatskih ubrzivacˇa jednak je kao i sˇto je bio vec´ kod prvih prototipova
sagradenih pocˇetkom tridesetih godina prosˇlog stoljec´a. Najuspjesˇniji od njih bili su
Cockroft-Walton i van de Graaff ubrzivacˇi. 1932. J. Cockroft i E. Walton sagradili su
na Cambridgeu ubrzivacˇ baziran na multiplikaciji napona koji je mogao ubrzati pro-
tone na 380 keV-a. Desetljec´ima je koriˇsten kao izvor neutrona badurajuc´i se na (d,
n) reakcijama sve dok se nije pocˇelo primjenjivati istu stvar na novim generacijama
MV tandem ubrzivacˇa napravljenih bez pokretnih djelova.
R.J. van de Graaff deminstrirao je 1931. u Princetonu kako proizvesti 1 MV raz-
like potencijala izvedu terminala dva generatora nabijanih remenom. Van de Gra-
aff ubrzivacˇ je i dan danas najbolji poznati tip elektrostatskog ubrzivacˇa. Njegov
glavni dio jest generator visokog napona. Sastoji se od jedinstvenog prijenosnog re-
mena koji prenosi elektrostatski naboj (proizveden istosmjernim generatorom) sve
do sˇupljikastog terminala. Visok istosmjerni potencijal zadrzˇava se kontinuiranim
odlaskom naboja nazad u zemlju preko djeljitelja napona velikog otpora. Snop pozi-
tivnih iona dobiva se iz radiofrekventnog izvora ugradenog na visokonaponski termi-
nal. Pozitivni ioni se ubrzavaju kroz ubrzivacˇku cijev formirajuc´i MeV snop iona.To
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je primjer ,,single-end” ubrzivacˇa i uglavnom se koristi za plinove H, He, Ne itd.
Svestranija verzija van de Graaff ubrzivacˇa je ,,tandem”. Oni posjeduju izvor ne-
gativnih iona izvan ubrzivacˇa, analizirajuc´i magnet, dvo-stupanjski ubrzivacˇki sustav,
sustav za skidanje elektrona (,,stripper”), skretni magnet te pripadne snopovske ci-
jevi. Ovakav ubrzivacˇ obicˇno ima dva negativna ionska izvora, prvi za H i He ione
koji mogu biti RF i duoplasmatron tipa, a drugi koji je dobar za sve ostale elemente
- obicˇno sputter izvor. Analizirajuc´i magnet obavlja istu funkciju kao kod implan-
tacijskog tipa ubrzivacˇa. Pozˇeljno je da bude tipa 90° kako je tada kvaliteta 1/200
lako ostvariva. Sustav za skidanje elektrona sa snopa ubrzanih negativnih iona nalazi
se na visokonaponskom terminalu. i obicˇno je graden od tanke ugljikove folije (2-5
µg/cm2), ili nisko-tlacˇnog plina unutar uskog kanala.
Ubrzani ioni se ponovi ubrzavaju pomoc´u iste razlike potencijala. Ukupna ener-
gija (keV ili MeV) koji dobije ion je (n+1)qV, gdje je n nabojno stanje iona nakon
strippera, q je naboj elektrona, a V napon na terminalu (ne uzimamo u obzir na-
pon primjenjen kod ionskog izvora koji je reda nekoliko desetaka kV). Skretni mag-
net obavlja dvojaku ulogu, najprije izdvaja medu ionima razlicˇitih nabojnih stanja
koji izlaze iz strippera zˇeljene te usmjerava ionski snop u zˇeljenu snopovsku cijev.
U usporedbi s van de Graaff ubrzivacˇima dostupan je vec´i raspon energija i vec´ina
razlicˇitih iona. Maksimalni postignuti napon je 35 MV no vec´ina ih radi u niskom
MeV podrucˇju kako je to podrucˇje nazanimljivije kod istrazˇivanja materijala. Umjesto
obicˇnog remena vec´ina novih danasˇnjih ubrzivacˇa rabe lance napravljene od izolator-
skih i metalnih veza (NEC pelletrons) ili cˇvrsto-stanjske izvore kao ranije navedene
(High Voltage Europe).
Za proizvodnju jako fokusiranih ionskih snopova najbolji izbor su ioni tekuc´ih me-
tala zbog male povrsˇine emisije iona sˇto je preduvjet proizvodnje takvog snopa. Takvi
se snopovi tad uvode u uzastopni niz otvora, deflektora, nereflektirajuc´ih otvora i
lec´a. Lec´e se prilagodavaju kako bi se snop fokusirao na povrsˇinu mete. Cˇestice koje
se rasprsˇuju na prvom otvoru znacˇajno se gusˇe drugim. Pozicija snopa na povrsˇini
mete mozˇe se prilagodavati serijom deflektora. Rezolucije ostvarive ovakvim posta-
vom su izmedu 500 i 100 nm.
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2.2.3 Visokoenergetski ubrzivacˇi
Kod linearnih visokoenergetskih ubrzivacˇa cˇestice prolaze kroz odredenu razliku
potencijala nekoliko puta. To se postizˇe kod linearnog ubrzivacˇa (LINAC) pomoc´u
visokofrekventnog vala koji putuje istom brzinom kao i grupa cˇestica.To podrazu-
mijeva faznu stabilnost grupe cˇestica kako se cˇestice koje pristizˇu prije vala uspora-
vaju dok se cˇestice iza ubrzavaju. Konstruirajuc´i uzastupni niz sˇupljina uz visoko-
frekventno polje izmedu tako da se valna brzina postepeno povec´ava s prijedenom
udaljenosˇc´u imamo neto ubrzanje grupe cˇestica. Ovaj koncept omoguc´ava ubrzanje
cˇestica razlicˇitih masa na istu brzinu samo mijenjajuc´i napon kroz sˇupljine. Snop
cˇestica se ubrzava u obliku pojedinih pulseva. Ove ubrzivacˇe karakterizira velika
duljina driftnih cijevi i velike frekvencije valova za ubrzavanje.
Kod ciklotronskih visokofrekventnih ubrzivacˇa snop cˇestica putuje kruzˇnom puta-
njom unutar sˇupljih elektroda (,,D”), uz sˇupljinu izmedu svakog poluciklusa. Kruzˇno
gibanje cˇestica ostvareno je uniformnim magnetskim poljem. Visoka frekvencija za
ubrzavanje primjenjuje se samo na sˇupljine. Kako cˇestice prolaze svaki poluciklus u
isto vrijeme, neovisno o brzini, ta frekvencija mozˇe ostati ista sve dok se pocˇnu jav-
ljati relativisticˇki efekti. Tada je potrebno prilagodavati polje kako bi odrzˇali stalnu
fazu kruzˇenja. Kako se radijus kruzˇenja cˇestica povec´ava proporcionalno korijenu
energije ukupna putanja cˇestica postaje spiralna. Snop treba biti uveden blizu sre-
dine D elektroda te sproveden sve do maksimalnog radijusa ciklotrona. Ukupan snop
tada pulsira frekcvencijom slicˇnom kao kod LINAC-a. U nekim slucˇajevima ciklotroni
mogu imati vrlo male dimenzije sˇto im je velika prednost u odnosu na elektrostatske
ubrzivacˇe.
Poslijednji tip visokofrekventnog ubrzivacˇa naziva sinhrotron umjesto kruzˇenja
cˇestica po spiralnim putanjama kao kod ciklotrona prisiljava cˇestice na gibanje po
kruzˇnim putanjama stalnog radijusa gdje se magnetsko polje i frekvencija sˇupljina
povec´avaju tijekom ciklusa ubrzavanja. To omoguc´ava koriˇstenje jeftinijih manjih
magneta te u isto vrijeme postizanje puno vec´ih energija. Primjer takvog postrojenja
je sinhrotron u Gesellschaft fu¨r Schwerionenphysik (GSI) Darmstadt.
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2.2.4 Radioaktivni izvori i nuklearni reaktori
Primjena gotovo svih radioaktivnih izvora je ogranicˇena na proizvodnju α cˇestica
sa dobro definiranim energijama. Vazˇniji α izvori su npr. .241Am (Eα = 5.49MeV
(85%) i Eα = 5.44MeV (13%); T1/2 = 433 god.) ili .221Th (Eα = 5.421MeV (71%) i
Eα = 5.338MeV (28%); T1/2 = 1.9 god.). Eα jest energija najvazˇnijih α cˇestica, a T1/2
vrijeme poluzˇivota nuklida. Reaktori koji koriste fisijske produkte kao i radionuklide
252Cf omoguc´ava istovremeno koriˇstenje spektra razlicˇitih cˇestica energija izmedu 50
i 100 MeV. Iako je tok cˇestica iz radioaktivnih α izvora malen (do 106 cˇestica/cm2 s−1
izotropno emitiranih), proizvode velike tokove iona koje iznose oko 1014 cm−2 s−1
za unaprijed usmjeren izotropni snop. Svojstva odreduju raspon primjena pojedi-
nih izvora: α uzorci se opc´enito koriste za kalibraciju, jednostavne eksperimentalne
testove i analiticˇke tehnike s niskim primijenjenim dozama kao sˇto je ionska transmi-
sijska spektrometrija (eng Ion transmission spectrometry). Fisijski produkti mogu se
koristiti kao jeftin i brz nacˇin pripreme ionskih tragova u polimerima.
Dok su 252Cf izvori dobri za razlicˇite male i jednostavne eksperimente dobivanja
ionskih tragova u laboratorijskim uvjetima, nuklearni reaktori se koriste za masovnu
proizvodnju folija s ionskim tragovima (komercijalni nazivi su npr. ,,Micropore” i
,,Nanopore” folije). Reaktori se koriste i za analiticˇke potrebe u nekim ogranicˇenim
slucˇajevima kao sˇto je primjena 7Li(n, α)5Be ili 11B(n, α)7Li nuklearnih reakcija za
dubinsko profiliranje (npr. neutronsko dubinsko profiliranje, eng - neutron depth pro-
filing technique) i neutronska aktivacijska analiza (eng. neutron activation analysis
- NAA) za odredivanje koncentracije i raspodjele necˇistoc´a s velikom preciznosˇc´u.
Za sve druge primjene, ukljucˇujuc´i proizvodnju folija s ionskim tragovima najbolje
kvalitete, koriste se ionski ubrzivacˇi.
2.2.5 Komore s metama
Ionski implantatori jednako kao i moderni ionski ubrzivacˇi posjeduju barem jednu
snopovsku cijev gdje se snop mozˇe odmicati vertikalno i horizontalno tipicˇnom frek-
vencijom 1 kHz kako bi se osigurala jednolika implantacija (iznad 1 %) nad povrsˇinom
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reda velicˇine 40 cm2. Kontrola doze zracˇenja vrsˇi se pomoc´u Faradayeve cˇasˇice (,,Fa-
raday cup”) koja se nalazi u kutevima kvadrata koji je odmah iza nosacˇa uzorka. Uz
elektronicˇki postav moguc´e je vizualno predocˇiti i prilagoditi odmicanje snopa kako
bi se kontroliralo podrucˇje uzorka i unesena doza. Uzorak treba biti cˇvrsto fiksiran za
nosacˇ kako bi se uncˇikovito odvodila disipirana energija (u obliku topline). K tome
je potrebno da nosacˇ bude izracˇen od toplinski vodljivog materijala (npr. Cu) ve-
like mase (velikog toplinskog kapaciteta) s dobrim toplinskim kontaktom s vanjskom
posudom (eng. external vessel).
Tokom ozracˇivanja polimera treba paziti da ne dode do prevelikog prijenosa to-
pline osjetljivog uzorka. Kao grubo pravilo koje uvijek vrijedi je da unutar volu-
mena uzorka polimera ne smije biti viˇse od 25 mW deponirane snage. U slucˇaju
potrebe, nosacˇ uzoraka se mozˇe prikljucˇiti na hladenje ili grijanje kako bi se obav-
ljala ozracˇivanja na razlicˇitim temperaturama. Za ozracˇivanje polimera obicˇno se
primjenjuje raspon temperatura od tekuc´eg dusˇika pa sve do 500 °C. Na nosacˇ se
tada obicˇno stavlja termocˇlanak, ali losˇa ekstrapolacija izmjerene temperature na
onu od polimera je nezahvalan zadatak zbog njihove losˇe toplinske vodljivosti.
Konacˇno, sam uzorak mozˇe se montirati na dvo ili tro osovinski goniometar
kako bi se omoguc´ilo ozracˇivanje uzorka u razlicˇitim smjerovima. To je od posebne
vazˇnosti za tomografiju i ostala ispitivanja gdje ulogu igra prostorni smjer zracˇenja
kao sˇto je istrazˇivanje putanja i transmisije penetranata te elektricˇne vodljivosti u po-
limerima ozracˇenim ionima. Za energije cˇestica ispod 1 MeV/amu ozracˇivanje uzorka
obicˇno ide in situ unutar implantacijske komore. U slucˇaju ozracˇivanja velikih poli-
mernih uzoraka koji su lako isparivi potrebno je osigurati efikasno ispumpavanje
komore s metom kako tlak u komori tijekom ozracˇivanja ne bi porastao i tako poten-
cijalno ugrozio osjetljivu ubrzivacˇku opremu.
Za energije cˇestica iznad 10 MeV/amu (domet iona u krutoj tvari iznad 100 µm)
ionski snop se mozˇe propustiti kroz 5 do 10 µm tanku metalnu foliju kako bi se
ozracˇivanje moglo obaviti izvan ubrzivacˇa. To omoguc´ava proucˇavanje npr. unu-
tar snopovskih radiokemijskih reakcija (eng. in-beam radiochemical reactions) s
razlicˇitim prostornim svojstvima plina (sastav plina, vlazˇnost, tlak itd.). Prednost
jednostavnijeg rukovanja uzorkom je, u ovom slucˇaju, suprostavljena povecˇanom
kutnom i energetskom rasapu snopa nakon prolaska kroz tanku foliju.
Osim standardnih prethodno opisanih postupaka ozracˇivanja postoji viˇse specijal-
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nih postupaka. Zbog prakticˇne vazˇnosti polimernih ionskih tragova opisat c´e se samo
tehnike vazˇne za njih. Kako bi se ozracˇivale polimerske folije do ∼ 1m sˇirine, snop se
otklanja horizontalno dok se folija pomicˇe vertikalno. To otklanjanje uzrokuje nuzˇno
djelomicˇnu divergenciju snopa. Npr. u postrojenju u Dubni divergencija iznosi ±0.7°
mjereno 30 cm sˇirokom trakom1. Ta divergencija se nadodaje na divergenciju mirnog
snopa koje iznosi ±1.4° (odredeno iz divergencije jetkanih tragova2 ).
2.3 Polimeri
Polimeri su makromolekule izgradene od velikog broja ponavljajuc´ih molekular-
nih jedinica medusobno povezanih kovalentnim vezama. Razlicˇite molekule i odvo-
jeni segmenti istih molekula medusobno se povezuju van der Waalsovim silama. Pri-
sutne kovalentne veze su karakterizirane velikim energijama (146 do 628 kJ mol−1),
kratkim meduatomskim razmacima (0.11 do 0.16 nm) i relativno stalnim kutevima
medu susjednim vezama. Kovalentne veze odreduju toplinsku i fotokemijsku stabil-
nost polimera. Polimeri imaju veliki omjer cˇvrstoc´a kroz masa, jednostavno se obli-
kuju, lagani su i vrlo su jeftini za proizvodnju. Organizirani su na nekoliko razlicˇitih
razina:
• Primarna struktrura je kemijski gradena od monomera i karakterizirana pri-
sutnosˇc´u danih funkcionalnih skupina i pripadnom elektronskom strukturom.
• Sekundarna struktura je lanac karakteriziran sa 102 do 105 ponavljajuc´ih jedinica
u polimernom lancu.
• Tercijarna struktura (,,molekularna konformacija”) je globalni oblik makromo-
lekule (jedinicˇne c´elije) predodredena slabim van der Waalsovim silama, vodikovim
vezama i ukupnim konformacijskim ogranicˇenjima. Opc´enito, molekule su poredane
u cik cak i helikoidalne konfiguracije. Lanci najcˇesˇc´e nisu linearni vec´ su zamotani
ili presavijeni (karakteristicˇne duljine 10-100 nm) s odredenim praznim prostorom
izmedu. Mogu biti vlaknasti, razgranati ili krizˇno savijeni preko kovalentnih veza kao
samostalne jedinice ili prepleteni s ostalima.
• Amorfne ili kristalinicˇne strukture (tipicˇna velicˇina 1-10 µm) kao kvartarne
1Apel PYu, personal communication (2001)
2Fink D, unpublished measurement (2002)
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strukture. Vec´ina polimera ima monokristale gradene od viˇse platela (lamela) postav-
ljene jedne iznad druge sa sve manjim i manjim dimenzijama. Savijanje makromole-
kulskih lanaca dogada se tijekom polimerizacije. Dugacˇki lanci se tad poravnavaju u
tanke lamele tipicˇne debljine od oko 10 nm i molekularnog lanca duljine oko 100 do
1000 nm.
• Jedinicˇne cˇelije ili lamele se mogu globalno poredati i josˇ vec´e jedinice pod
nazivom sferulite (tipicˇna velicˇina oko 100 µm).








− lanaca duzˇinom osnovice polimera zovu se ,,ho-
mopolimeri”. Kod ,,heterolancˇanih” polimera ugljikovi atomi duzˇ osnovice su zami-
jenjeni s atomima ostalih elemenata (vidi Slika 2.9a). Kod ,,homopolimera” uglji-
kovi atomi na osnovici polimera mogu biti vezani jednom vezom: ili dvjema:
, gdje X, Y, Z, R=H, CH3 itd. Na slici 2.9b vidimo neke tipicˇne homopolimere s
jednom vezom. Polimeri mogu biti gradeni simetricˇno (npr. X=Y, Z=R) ili antisime-
tricˇno. U slucˇaju antisimetricˇnosti ih mozˇemo klasificirati prema njihovoj stereore-
gularnosti. Mozˇemo razlikovati izotakticˇne, sindiotakticˇne i atakticˇne polimere. Sve
do sad jedva da se proucˇavao utjecaj zracˇenja na ovakve strukture. Jednostavni poli-
merski lanci mogu formirati ogranke od glavnog lanca: −C
|
−. Razgranatost smanjuje
potencijal za pravilno molekularno pakiranje sˇto smanjuje gustoc´u polimera (npr. u
slucˇaju polietilena male gustoc´e - LDPE u odnosu na nerazgranati HDPE, PE velike
gustoc´e).
Osim posjedovanja dodatnih grana polimeri mogu biti i krizˇno presavijeni: .
Krizˇno presavijanje ili ,,vulkanizacija” mozˇe se postic´i a) ukljucˇivanjem u proizvodnju
pogodnog katalizatora (,,inicijator”) cˇime se dobivaju tzv. ,,duromeri” (eng. thermo-
sets ili duroplasts), b) dodatkom kemijskog ucˇvrsˇcˇivac´a (npr. kod epoxy otopina),
c) toplina ili d) ionizacijska radijacija - nama najzanimljivije. Pretvorba tekuc´ine ili
polukrutine u krizˇno presavijenu strukturu zovemo ,,curing” (stvrdnjivanje). Vulka-
nizacija mozˇe trosˇiti vodu (npr. kod vulkanizacije silana). Duromeri imaju veliku
otpornost na uobicˇajena otapala, a primjenom topline im se svojstva degradiraju
postepeno bez odredene tocˇke taliˇsta. Polimeri koji nisu prosˇli ovaj postupak stvrd-
njivanja i mogu se pretopiti u druge oblike nazivaju se ,,termoplasti”.
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Obje polimerske bocˇne skupine i njihova geometrijska pozicija utjecˇu na svojstvo
polimera. Postoji prakticˇno beskonacˇno tzv. konformacija danog polimerskog lanca
zbog njegove velicˇine i rotacijskih stupnjeva slobode vec´ine kovalentnih veza sˇto uz-
rokuje nasumicˇno, prepleteno stanje polimerskih lanaca u talinama i koncentriranim
otopinama. Kod kopolimera makromolekule se sastoje od dva ili viˇse tipova poli-
mera. Kod smjesa polimera imamo mjesˇavinu viˇse, cˇesto nemjesˇivih makromolekula.
Zbog razlicˇitih preplitanja polimerskih lanaca polimeri opc´enito ne kristaliziraju u
potpunosti cˇak ni pod vrlo velikim brzinama hladenja nego ostaju ili potuno amorfni
ili polukristalinicˇni. Polukristalinicˇni polimeri sadrzˇe kristalne dijelove gdje su lanci
okrenuti paralelno jedni drugima s nekim posebnim redom. Kod polimera velike mo-
lekulske mase lanac pripada najcˇesˇc´e u nekoliko kristalnih uredenja (kistalita). To
uzrokuje stres tokom rasta kristala i onemoguc´ava potpunu kristalizaciju cˇak i kod
molekula s pravilnim rasporedom i bez sporednih skupina.
Stupanj kristalizacije kod polimera opisuje odnos kristalne prema amorfnoj kom-
ponenti. U praksi, vec´ina je polimera djelomicˇno kristalinicˇno. Kod kristalinicˇnog
polimera segmenti su cˇvrsto vezani unutar kristalita medumolekulskim silama. Gri-
janjem kristalinicˇnog polimera na visoke temperature molekularna mobilnost pove-
zana sa segmentalnom mobilnosti se naglo povec´a i polimer se pocˇinje topiti. Ispod
ove temperature amorfna podrucˇja se mogu pretvoriti u viˇse kristalinicˇna orijenta-
cijom, npr. istezanjem. Stereoregularni (npr. izotakticˇni i sindiotakticˇni) polimeri
kristaliziraju dok atakticˇni nisu u moguc´nosti. I temperatura i kristalinicˇnost (ovisi o
temperaturi) utjecˇu na makroskopska svojstva kao sˇto je modul smicanja i elasticˇnosti
te moguc´nost jetkanja .
Za kristalizaciju polimera potrebni su nukleacijski centri. Nukleacija mozˇe biti ho-
mogena ili heterogena. Homogena nukleacija poslijedica je nekog slucˇajnog dogadaja,
tocˇnog poretka molekula ili zbog postojanja kristalinicˇnih mjesta prezˇivjelih od pret-
hodnog ocˇvrsˇc´ivanja (eng. soldification). Heterogena nukleacija se ne mozˇe dobro
kontrolirati pa se obicˇno dodaju nukleacijski centri kako bi ju se zapocˇelo.
2.3.1 Kristalinicˇnost i temperaturna ovisnost
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Slika 2.9: a) Tipicˇne osnovice nekih heterolancˇanih polimera. S lijeva na desno
imamo polietere, poliestere, polisiloksane, poliuretane, poliamide, polisulfone, poli-
imide i polisilane. b) tipicˇni homopolimeri. Odozgora prema dolje imamo polieti-
len, politetrafluoretilen, polipropilen, polivinil klorid, polistiren, poliizobutilen (butil
guma), polimetilmetakrilat. [6]
Kod polimera kao sˇto je PET, tri domene, kristalinicˇna, ogranicˇeno nekristal-
inicˇna i amorfna postoje simultano u razlicˇitim omjerima.Stupanj kristalizacije Wc
je odredeno s Wc = ∆Hm,obs/∆Hm,0 gdje je ∆Hm,obs = ∆Hm − ∆Hc, ∆Hm toplina
taljenja, ∆Hc toplina rekristalizacije te ∆Hm,0 toplina fuzije potpuno kristalinicˇnog
polimera (npr. kod PET: ∆Hm,0 = 120 J/g = 5.8 kcal/mol).
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Kristalinicˇnost polimera se mozˇe postic´i na barem dva razlicˇita nacˇina. Potpuno
kristalinicˇni materijal proizvodi se toplinskim prekaljivanjem (eng thermal anneal-
ing). Osim toga, mozˇe se inducitati kristalizacija i izvlacˇenjem amorfnih listova.
No, prava kristalinicˇnost kao i naprezanjem inducirana kristalinicˇnost (eng strain-
induced crystallinity - SIC) uzrokuju dosta razlicˇite strukture. Dok se kod prave
kristalinicˇnosti PET-a glikolne grupe pojavljuju iskljucˇivo u obliku trans konformera,
a karbonilne grupe su koplanarne s benzenskim prstenima te takoder u trans kon-
formaciji, pripadna SIC struktura ima produzˇenu trans-glikol strukturu, prstenaste
karbonilne grupe imaju istu konformaciju kao amorfni materijal, vjeruje se da sadrzˇi
dio konfirmacija izvan ravnine. Sa formacijom kristalita tijekom toplinskog prekalji-
vanja, PET prolazi kroz medustrukturu slicˇnu SIC strukturi gdje su glikolne skupine
pretvorene iz gauche u trans. Kako karbonilne grupe nisu potpuno trans u odnosu na
prsten, molekule ne mogu biti efikasno pakirane u pravu kristalnu strukturu. Samo
kada se karbonilne grupe zarotiraju u ispravnu konfiguraciju mozˇe se ostvariti prava
kristalinicˇnost.
Kinetika PET kristalizacije kontrolira se s inicijalnom orijentacijom i temperaturom
prekaljivanja. PET lancˇani segmenti trans konformacije pocˇinju se kristalizirati vec´
ispod temperature staklastog prijelaza Tg, ali snazˇna kristalizacija je jedino uocˇena
iznad ≈750 °C. Prekaljivanje iznad Tg je zbog segmentalne mobilnosti i smanjuje
barijeru slobodne energije za formaciju jezgara koja je u moguc´nosti povec´ati brzinu
rekristalizacije. Opc´enito, trans konformer je glavna komponenta u kristalizacijskoj
fazi dok je gauche transformer primarno prisutan u presavijenim lancima i amorfnoj
fazi, na karajevima lanaca.
Kristalinicˇnost polimera je funkcija osjetljiva na kristalizacijsku temperaturu i vri-
jeme prekaljivanja. S povec´anjem temperature prekaljivanja i vremena imamo si-
multani rast domena i za pravu kristalinicˇnost (svi trans) i ogranicˇenu nekristal-
inicˇnost (trans bogato) u slucˇaju PET na usˇtrb amorfne faze (gauche bogato), ali
dok ogranicˇene nekristalinicˇne domene rastu kontinuirano rast pravih kristalinicˇnih
domena saturira. Situacija je razlicˇita za α − PV DF . Kod njega je pronadeno da i
mali porast temperature iznad okolne (80°C) dovodi do kompletnog nestanka (110)α
i (110)β refleksa (eng. reflex) te postepenog smanjenja (111) i (020) sve do nestanka
izmedu 150 i 200 °C.
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2.3.2 Amorfnost i nehomogenost polimera
Amorfni polineri ne kristaliziraju i postoje kao staklaste krutine. Na temperaturi
staklastog prijelaza Tg uvidamo segmentalnu mobilnost. Ta temperatura je tocˇka
faznog prijelaza drugog reda lancˇane mobilnosti. Tocˇna vrijednost te temperature
ovisi o brzini hladenja. Ispod nje polimer je staklast (lomljiv i tvrd). Iznad nje
polimer je viskozna tekuc´ina i slicˇan gumi. Konkretne promijene znatno ovise o tipu
polimera. Na temperaturi nastanka tekuc´ine, kada imamo potpunu molekularnu
mobilnost, polimer mijenja stanje iz slicˇnog gumi u tekuc´e te poc´inje tec´i. Razlog
postojanja dodatne kriticˇne temperature je vec´i stupanj slobode koju imaju komplek-
sni molekularni lanci, u usporedbi s jednoatomskom tvari. Zbog odsutnosti kristalne
resˇetke kod amorfnih polimera nema pravog taljenja kao ni same temperature taliˇsta.
Ispog Tg dugodosezˇna difuzija polimerskih lanaca je blokirana i nasumicˇna kaleml-
jena struktura taljevine zamrznuta. U neravnotezˇnom staklastom stanju samo su
moguc´a lokalna gibanja polimerskih segmenata koji potpomazˇu difuziji malih molekula
dok makromolekule ostaju nepomicˇne na skali eksperimenta. Neravnotezˇna priroda
staklastog stanja uzrokuje memoriranje prosˇlih stanja kod transportnih svojstava i po-
jave lokanih nehomogenosti. Npr. u slucˇaju strukturne relaksacije koja je poprac´ena
kalemljenjem vec´eg volumena, mozˇe se uzrokovati znatno smanjenje moguc´nosti
difuzije penetranta u polimer. Kristalinicˇnost ne mijenja Tg u mjerljivoj mjeri, ali
moguc´e je da stericˇno ogranicˇenje uvedeno od strane kristalinicˇnih podrucˇja koja
utjecˇu na susjedna, inacˇe mobilna podrucˇja polimerskih segmenata, povec´a Tg.
Slozˇeni polimeri su u pravilu viˇse ili manje nehomogeni. To pogotovo vrijedi za
razlicˇite, komercijalno dostupne plastike. Cˇak i kada se polimer sastoji od samo jedne
faze mozˇemo razlikovati nehomogenosti svojstava, koje se naziva strukturnim gradi-
jentima. Kod heterogenih polimerskih materijala raznolikost strukturnih gradijenata
je sˇira. Mogu potjecati od:
• domena iz staklastog stanja i stanja velike elasticˇnosti
• razlika u stupnjevima krizˇnog presavijanja
• usmjerenih i neusmjerenih domena
• podrucˇja s razlicˇitim molekularnim masama formiranih zbog spontane fraktacije
(npr. smicˇni tok, eng. shear flow)
• amorfnih i kristalinicˇnih domena
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• domena s razlicˇitim stupnjevima mikroheterogenosti kod stereoregularnih poli-
mera
• domena s razlicˇitim prostornim (gauche-trans izomerizam) i kemijskim struktu-
rama
Industrijski polimerski proizvodi cˇesto sadrzˇe strukturne gradijente zbog razlicˇitih
organskih i anorganskih primjesa i necˇistoc´a. To su stabilizatori, antioksidanti, plas-
tifikatori, punila, boje, tragovi katalizatora itd. Svi strukturni gradijenti uzrokuju
lokalnu anizotropiju difuzinih i kemijskih svojstava.
2.3.3 Usporedba kristalinicˇne i amorfne faze u polimerima
Dok se amorfna faza u polimerima dobro otapa u raznim otapalima, kristalinicˇnu
fazu je cˇesto potrebno najprije zagrijati iznad temperature taliˇsta. Kao opc´e prav-
ilo, visoka kristalinicˇnost je korelirana s niskom topivosti i visokom tocˇkom taliˇsta.
Taliˇste se smanjuje s necˇistoc´ama kao sˇto su razrijedivacˇi male molekularne mase, ali
i gomilom zavrsˇetaka lanaca. Polimersko stanje ispod temperature staklastog prije-
laza se zove staklasto. Iznad te temperature imamo podrucˇje svojstva kozˇe, karakter-
izirano smanjenjem modula elasticˇnosti s povec´anjem temperature i podrucˇje slicˇno
gumi s konstantnim modulom. Sˇto je manje polimer kristalinicˇan to je vec´e sman-
jenje modula elasticˇnosti kod podrucˇja slicˇnog kozˇi. Sˇto je vec´a duljina polimerskih
lanaca i stupanj prepletenosti vec´e je temperaturno podrucˇje u kojem se polimer
ponasˇa poput gume. Josˇ vec´im povec´anjem temperature polimer prelazi u stanje
tekuc´e gume gdje lanci postaju lako gibljivi sve dok naposlijetku ne nastupi potpuno
taljenje. Povec´anjem kristalinicˇnosti razlika izmedu podrucˇja slicˇnih gumi i kozˇi se
smanjuje.
Dostupnost odnosno reaktivnost kemijski aktivnih veza u polimerskom lancu (slabe
veze, aktivna mjesta) ovise o strukturnoj heterogenosti. Npr. slabe veze su jacˇe dos-
tupne u amorfnoj fazi nego u kristalinicˇnoj. Kristaliti su obicˇno smatrani neprobo-
jnim otocima uronjenima u kontinuum propustljive amorfne tvari. Difuzivnost pen-
etranata u kristalinicˇnoj fazi je dokazano vrlo mala u odnosu na amorfnu. Slobodni
volumen kod amorfnih domena omoguc´uje viˇse slobode za prerazmjesˇtanje lancˇanih
segmenata i olaksˇava bilo kakvo cijepanje lanaca u slucˇaju ozracˇivanja. Toplinska
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stabilnost polimera mjeri se njegovim omeksˇavanjem i temperaturama degradacije.
Aromatski i heterociklicˇni polimeri su poznati po izvrsnim toplinskim svojstvima. Ne
meksˇaju se i zadrzˇavaju formu do na visoke temperature. Krutost materijala je pri-
blizˇno proporcionalna koncentraciji krizˇno presavijenih lanaca.
2.4 Najcˇesˇc´i polimeri
Jedna moguc´nost za klasifikaciju polimera je koristiti njihov stupanj prepletenosti.
,,Termoplasti” su linearne i slabo razgranate molekule sa zanemarivom prepletenosˇc´u.
Njihova tvrdoc´a, elasticˇnost kao i temperatura staklastog prijelaza su relativno niski,
a vlacˇna cˇvrstoc´a velika. Proizvode se polikondenzacijom, polimerizacijom ili poliadi-
cijom. Tipicˇni predstavnici si PC, poliamid, PE, PP, PMMA i poliuretan. ,,Elastomeri”
su slabo prepleteni, jako rastezljivi odnosno elasticˇni polimeri. Tvrdoc´a im je mala,
a temperatura staklastog prijelaza i vlacˇna cˇvrstoc´a osrednja. Tipicˇni predstavnici su
poliuretan i izopren. ,,Duromeri” imaju izrazito krizˇno presavijene lance, a proizvode
se polikondenzacijom ili poliadicijom. Mogu ostvariti veliku tvrdoc´u, njihova temper-
atura staklastog prijelaza je velika, no elasticˇnost i vlacˇna cˇvrstoc´a niska te nemaju
izrazˇen prijelaz iz staklastog u stanje slicˇno gumi. Tipicˇni predstavnici su poliuretan,
epoksi i fenolformaldehid.
Vazˇno svojstvo polimera je sposobnost kvasˇenja (eng. wettability) odredena kriticˇnom
povrsˇinskom napetosˇc´u (eng critical surface tension) γc. Prema njemu imamo tri
kategorije, niska sposobnost (30mJ/m2 > γc > 10nmJ/m2, u koju spada vec´ina
floropolimera, poliolefina i polisiloksana), srednja sposobnost 40mJ/m2 > γc >
30nmJ/m2, gdje spada PS, PVA, PMMA i PVC kao vazˇniji primjeri) i velika sposob-
nost (γc > 40nmJ/m2, gdje spada vec´ina kondenzacijskih polimera, PC, PET, PAN,
PI, najlon i epoksi smola kao tipicˇniji materijali).
U ovom poglavlju izlozˇit c´e se najvazˇniji polimeri koriˇsteni za proucˇavanje radi-
jacijskih pojava unutar opsega ovog rada. Iz te perspekitve, ogranicˇit c´e se samo
na detaljima vezanim uz tu temu. Za viˇse detalja mozˇe se pogledati velik broj izvr-
sne literature na temu polimera. U poglavlju 2.4.1 obraduju se poliolefini kod kojih
imamo polietilen, polipropilen, polistiren i polimetil metakrilat. U 2.4.2 analiziraju
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se polieteri kod kojih imamo polietilen eter keton i celulozu. U 2.4.3. su poliesteri
od kojih imamo polietilen tereftalat, polikarbonat i polialil diglikol karbonat. Kod
2.4.4 obraduju se polivinili od kojih nam je najznacˇajniji polivinilden florid i polivinil
klorid. U poslijednjem poglavlju 2.4.5 imamo poliimide.
2.4.1 Poliolefini
Polietilen (PE) otkriven je rane 1933. Postoji viˇse razlicˇitih tipova koji se razlikuju
u broju i dujini sporednih lanaca, pa k tome imaju i razlicˇite medulancˇane razmake
te razlicˇit stupanj kristalizacije (tipicˇno 40 do 80 %). Najvazˇnije su dvije modifika-
cije polietilena od kojih je jedna modifikacija velike gustoc´e (HDPE), a druga male
gustoc´e (LDPE), a razlikuju se u stupnju krizˇnog presavijanja lanaca, odnosno krista-
liicˇnosti (HDPE: 60-80 %, LDPE 40-50 %) i gustoc´e (HDPE: 0.942 do 0.965 g cm−3,
LDPE: 0.917 do 0.939 g cm−3). U usporedbi s drugim polimerima svi polietileni
imaju relativno malu gustoc´u, izvrsna elektricˇna i dielektricˇna svojstva, veliku otpor-
nost na kemijska sredstva te dobra mehanicˇka svojstva. PE je hidrofoban, odnosno
prima samo malu kolicˇinu vode. Dodatno, polimerske mjesˇavine sa PE su dobile na
velikoj vazˇnosti zbog brojnih primjena.
Polipropilen (PP) je izotakticˇni poliolefin s CH3 kao sporednim lancem. Pro-
izvodi se polimerizacijom propilena. Najlaksˇi je poznati industrijski polimer te ima
veliki faktor cˇvrstoc´a - tezˇina. Kako je visoko kristalinicˇan posjeduje veliku krutost,
tvrdoc´u i vlacˇnu cˇvrstoc´u te ima odlicˇna mehanicˇka i dielektricˇna svojstva. Dosta
je hidrofoban. U usporedbi s PET - najcˇesc´e koriˇstenim materijalom za proucˇavanje
nuklearnih tragova pomoc´u membrane - ima razlicˇita kemijska svojstva i losˇiju ot-
pornost na zracˇenje.
Polistiren (PS) je poliolefin sa fenolnim bocˇnim lancem. Losˇa mehanicˇka svojstva
kao sˇto je velika krtost i mala otpornost na sˇok mogu se znatno poboljˇsati kopoli-
merizacijom s nekim elastomerom, npr. butadien. Tako formirani materijal koji je
heterogen u µm i sub µm skali zbog formiranja granice izmedu gume i stiren kom-
ponente ima vec´u sposobnost upijanja vode nego PE te lako korodira u atmosferskim
uvjetima zbog komponente gume.
Polimetil metakrilat (PMMA). Vec´ 1873 sintetizirani su prvi akril esteri akrilne
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kiseline te je industrijska proizvodnja prethodnika PMMA zapocˇela vec´ 1907. Ko-
mercijalno ime Plexiglasr uvedeno je 1933. Monomeri metil metakrilata proizvode
se iz prirodnog ulja pomoc´u acetona i cijanidne kiseline. Mogu se polimerizirati u
PMMA na viˇse nacˇina. PMMA homopolimeri imaju veliku tvrdoc´u i cˇvrstoc´u, ali su
krti. Ova losˇa osobina se mozˇe potpuno izbjec´i kopolimerizacijom s elastomerom kao
sˇto je polibutadien. Kopolimerizacija s stirenima vodi na vizualno bistre modifikacije.
PMMA je jaki izolator. Dobra dielektricˇna svojstva posjeduje samo u granici niskih
frekvencija. Njegova obradivost je odlicˇna no lako je zapaljiv. PMMA je vrlo proziran
(˜92 %) za vidljivu i UV svjetlost.
Veliki interes je pridodan floratnim polimerima kao sˇto je politetrafloroetilen
(PTFE) i ostalima, primjernjenim u podrucˇjima od medicine do mikroelektronike i ke-
mije zbog velike kemijske inertnosti, toplinske i mehanicˇke stabilnosti, netoksicˇnosti,
piroliticˇkih, feroelektricˇnih i pizioelektricˇnih svojstava. PTFE je linearan polimer koji
nema grananja lanaca. Visoko je kristalinicˇan. Ima vrlo malu dielektricˇnu kons-
tantu. Velika toplinska stabilnost je uvjetovana velikom energijom disocijacije (452
kJ mol−1) C-F veza. Osim vrlo elektronegativne prirode fluor sˇtiti C-C veze od vanj-
skog utjecaja. Koristi se za pumpne ventile i cijevi gdje je potrebna kemijska otpornost
te nalazi primjenu kod povrsˇinskih premaza u kuc´anstvu. PTFE mikroprah proizve-
den izlazˇuc´i polimer radijaciji od elektronskog snopa cˇesto se koristi u sˇirokom krugu
podrucˇja ukljucˇujuc´i kao sastojak lubrikanata.
2.4.2 Polieteri
Polietilen eter keton (PEEK) je polukristalinicˇni polimer sa visokom temperatu-
rom staklastog prijelaza (143°C) i visokom temperaturom taliˇsta (343°C). Relativno
je novi industrijski plasticˇni materijal te ima dobra toplinska, kemijska svojstva i ot-
poran je na radijaciju pa se mozˇe ocˇekivati da c´e biti primjenjen kao npr. elektricˇni
izolator. PEEK ima ketonsku vezu s dipolnim momentom u glavnom lancu. Po mjere-
nju toplinski stimuliranom strujom (TSC, eng. thermal stimulated current), uvidaju
se dva vrha α i β na 163 i 153°C. Drugi vrh je od depolarizacije PEEK dipola, a
poslijedica je staklastog prijelaza koji se odvija na 10°C nizˇoj temperaturi.
Celuloza se sastoji od plocˇastih molekula glukoze povezanih medusobno kisi-
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kovim mostovima. Polimer je dosta savitljiv na mjestima kisikovih mostova koji se
mogu savijati i rotirati. Prirodni je polimer i koristi se kod biljnih stanicˇnih mem-
brana. Cˇista celuloza, poli-β-1,4-D-anhidroglukoza, ima molekularnu tezˇinu sve do
˜13000 s malim rasapom vrijednosti. Zbog visoke kristalinicˇnosti i unutarmoleku-
larnih vodikovih mostova nije topiva u vodi. Vodikovi mostovi se formiraju snazˇnim
privlacˇenjem hidroksilnih (-OH) grupa. Prirodna celuloza ima slozˇenu strukturu koja
se sastoji od spiralnog skupa mikrofibrila, a zbog takve uvijenosti ima veliku me-
hanicˇku cˇvrstoc´u. Celuloza se mozˇe hidrirati u npr. otopinama metalnih kompleksa,
mozˇe se vrlo lako nitridacijom prevesti u celulozni nitrat (CN) ili u celulozu triacetat
(Triafol-N) reakcijom s octenom kiselinom. Mjesˇani celulozni ester je celuloza aceto
butirat (Triafol-BN) koja sadrzˇi i octene i butiratne skupine u razlicˇitim omjerima.
2.4.3 Poliesteri
Polietilen tereftalat (PET) formira se sukcesivnim dodavanjem 1,2 etan diola
(,,glikol”) i tereftalatne kiseline pa sadrzˇi dvije hidroksilne grupe (-OH) i dvije kar-
boksilne (-COOH). Kako se takva reakcija naziva ,,estering”, PET pripada katego-
riji poliestera. PET filmovi se dvoaksijalno rastezˇu tokom proizvodnje pa se njegovi
kristaliti usmjeravaju paralelno povrsˇini folije. Indeks kristalinicˇnosti mozˇe biti po-
prilicˇno visok, reda 50 %, tako da je permeabilnost, za npr. plinove, dosta niska. Kris-
talne lamele okruzˇene amorfnim podrucˇjem omoguc´avaju cijeloj strukturi da bude
mehanicˇki netaknuta. Ima vrlo dobru mehanicˇku cˇvrstoc´u od -196 do +175°C.
Polikarbonat (PC) ima znacˇajnu savitljivost lanaca. Postoji tzv. γ-relaksacija
na -72°C te β-relaksacija izmedu γ-relaksacije i Tg. β-relaksacija nestaje kalemlje-
njem i blisko je vezana s ireverzibilnim strukturnim odnosima koji se odvijaju ti-
jekom fizicˇkog starenja. To starenje ukljucˇuje relaksaciju stresa i kalemljenje viˇska
slobodnog volumena i defekata. To mu pogorsˇava vec´inu svojstava (npr. otpornost
na fraktaciju, eng. fracture toughness) i opc´enito vodi na smanjenje difuzivnosti pe-
netrirajuc´ih molekula. Ta strukturna relaksacija traje 1500 h na sobnoj temperaturi i
mnogo je brzˇa na poviˇsenim temperaturama. Iako je PC obicˇno amorfan, polako kris-
talizira ako ga se drzˇi oko temperature Tg. Tada je kristalinicˇnost materijala tipicˇno
oko 15 do 20 %.
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Polialil diglikol karbonat (PADC) sadrzˇi dugacˇke polialilne lance tipa -CH2 −
CHR-, koji su povezani poliesterom tipa dietilen glikol karbonat. Struktura PADC-
a karakterizirana je s dva glavna parametra: (1) koncentracija efektivnih dietilen
dikarbonat krizˇnih veza koje spajaju dva polialilna lanca te (2) prosjecˇna duljina po-
lialilnih lanaca. Oba ova parametra doprinose ukupnoj gustoc´i krizˇnih veza u PADC
mrezˇi. Shodno tome, PADC je jedna velika makromolekula. Ona je stabilna i nije
podlozˇna alkalnoj hidrolizi, njezina je brzina jetkanja manja nego kod ostalih mate-
rijala za proucˇavanje nuklearnih tragova. PADC struktura je kompletno homogena,
izotropna, a polimer prelazi iz iz gumenog stanja u tekuc´e. PADC lagana, savitljiva,
opticˇki bistra i visoko prozirna. Velika osjetljivost na radijaciju - 100 puta viˇse nego
npr. polikarbonat - cˇini ga omiljenim materijalom za detekciju nuklearnih tragova,
no utrka za dobivanjem josˇ osjetljivijih detektora tragova josˇ je daleko od zavrsˇetka i
zadnje je dobiven materijal imena SR-90 koji ima josˇ i bolja svojstva kao detektor.
2.4.4 Polivinili
Polivinilden florid (PVDF) koristi se od medicine do mikroelektronike i kemije
zbog velike kemijske inertnosti, toplinske i mehanicˇke stabilnosti, netoksicˇnosti, piro-
liticˇkih, feroelektricˇnih i piezoelektricˇnih svojstava. Vinilna grupa -CH2 −CH2 mozˇe
se kombinirati s viˇse drugih grupa kako bi se dobili monomeri koji se mogu poli-
merizirati u polivinile. Komercijalni PVDF (−CH2 − CF2−) filmovi imaju prosjecˇnu
molekulsku masu od tipicˇno 2×105 amu s gustoc´ama od 1.77 g cm−3 i taliˇstem od
160 °C. Imaju veliku kemijsku inertnost, dobru toplinsku i mehanicˇku stabilnost i
nisu toksicˇni. Zbog jake elektronegativnosti dva F atoma u CF2 ima veliki elektricˇni
dipolni moment okomito na polimerski lanac, sˇto je glavni razlog za neobicˇna elek-
tricˇna svojstva PVDF-a. PVDF je polukristalinicˇan polimer (kristalinicˇnost do 50 %) s
najmanje 4 razlicˇite faze; alfa faza je najcˇesˇc´a. Rekristalizacijom iz taline, formiraju
se sferuliti. Na poviˇsenim temperaturama (> 50 °C) PVDF pokazuje pad piroelek-
tricˇnih svojstava.
Polivinil klorid (PVC), sinteticˇka smola koja se dobiva polimerizacijom vinil klo-
rida Iza polietilena je najkoriˇstenija i najproizvodenija plastika. Primjenjuje se kod
mnogih kuc´anskih i industrijskih proizvoda, od kiˇsnih kabanica, zastora za tusˇeve pa
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sve do okvira za prozore i unutarnjih cjevovoda. U cˇistoj formi je lagan i krut, a mozˇe
se proizvesti u fleksibilnoj ,,plastificiranoj” formi. Pripada grupi polimera kojima je
omoguc´eno krizˇno vezivanje pod utjecajem zracˇenja. Vinilni klorid (CH2 = CHCl)
poznat i kao kloretilen, najcˇesˇc´e se dobiva reakcijom etilena s kisikom i klorovodi-
kom preko bakrenog katalizatora. To je toksicˇan i kancerogeni plin s kojim se rukuje
pod strogim zasˇtitnim mjerama. PVC nastaje podvrgavanjem vinil klorida visoko re-
aktivnim spojevima poznatim pod imenom radikalski inicijatori. Pod djelovanjem
inicijatora dupla veza monomera vinil klorida se otvara te se jedna od rezultantnih
veza koristi za medusobno vezivanje tisuc´a monomera od kojih je graden polimer.
Kemijska formula ponavljajuc´e jedinice vinil klorida je: −CH2 − CHCl−.
2.4.5 Poliimidi
Poliimidi (PI) formiraju klasu toplinski stabilnih polimera koji mogu podnijeti
viˇse operativne temperature od vec´ine danasˇnjih polimera koji su u upotrebi. Aromat-
ski poliimidi su medu atmosferski najotpornijim heterolancˇanim polimerima. Prisut-
nost imida i aromatskih prstena u strukturi polimera je kemijski razlog za poboljˇsanu
toplinsku otpornost i stabilnost na djelovanje ionizirajuc´eg zracˇenja. Osnovica ovih
aromatiziranih polietera je dosta kruta. Lanci mogu rotirati oko fenil eter veza. Ve-
lika gustoc´a odaje kompaktnu strukturu. Prosjecˇna udaljenost molekularnih lanaca je
oko 0.5 nm, a unutarmolekularna periodicˇnost 1.55 nm. PI formira uredene agregate
2 do 2.5 nm debljine koji se ne mogu smatrati kristalinicˇnima jer ne sadrzˇe dobro de-
finirane medumolekularne refleksije. Lokalno poravnanje lanaca je u smekticˇkoj va-
rijanti duzˇ osi lanca za nekoliko monomernih jedinica. Povrh segmentalne uredenosti
uocˇena je molekularna orijentacija paralelno povrsˇini filmova presvucˇenih spin-coat
metodom, a najnaglasˇenija za filmove u µm podrucˇju. Uocˇene su morfologije koje
variraju od polukristalinicˇne do bezstrukurnog stakla ovisno o pocˇetnoj temperaturi
imidizacije. Molekularni red usmjerenih filmova poboljˇsava se iznad 350 °C, a ne-
usmjereni filmovi pokazuju povec´anje kristalinicˇnosti iznad 400 °C. Danas se mozˇe
nabaviti fotoosjetljivi poliimid koji se mozˇe fotostrukturirati i stvrdnjivati metodom
curing, uz vec´ postojec´u osjetljivost na ionsko zracˇenje.
PI mozˇe podnijeti temperature od -269 °C do najmanje 430 °C bez ikakve degra-
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dacije. Tako npr. nalazi primjenu za povrsˇinske zasˇtitne slojeve ultrazvicˇnih letjelica.
PI nema tocˇku taliˇsta, a staklasti prijelaz se ocˇekuje izmedu 360 i 410 °C. Poliimidi
se nasˇiroko koriste ne samo za elektricˇnu izolaciju vec´ i za pasivizaciju i viˇseslojno
prespajanje u mikroelektronici, kako ima dobra svojstva za elektricˇnu izolaciju i kao
dielektrik, odlicˇnu toplinsku stabilnost i mehanicˇku cˇvrstoc´u. Fotoosjetljivi PI ko-
riste se kod visokoenergijske implantacije za proizvodnju IC kao pokrovni materi-
jal. PMDA-ODA poliimid filmovi pokazuju rezonance prijenosa naboja koje pripadaju
pomaku gustoc´e elektronskog naboja izmedu PMDA i ODA djelova molekule, odgo-
vornih za bojanje molekule. Piroliza proizvodi znacˇajan gubitak imidnih struktura
progresivnim smanjivanjem grupa koje sadrzˇe kisik i dusˇik zajedno sa znacˇajnom
promjenom elektricˇnih svojstava. Pocˇetno izolatorski PI (ρ = 1016 Ωcm) postaje polu-
vodljiv (ρ < 102 Ωcm)) pri temperaturi pirolize od oko 700 °C, te naposlijetku poput
metala (ρ = 10−2 Ωcm) pri 900°C. Znacˇajno povec´anje vodljivosti se opazˇa pri zagri-
javanju poliimida izmedu 800 i 850 °C, zbog formiranja guste heterociklicˇne mrezˇe
karbonskih prstenova unutar polimera.
2.4.6 Fizikalna svojstva polimera
U tablici 2.3 navedena su najvazˇnija svojstva polimera u okviru proucˇavanja ion-
skih tragova. Dane vrijednosti su koriˇstene kod analize velicˇine tragova ovisno o
zaustavnoj moc´i iona projektila.
2.5 Utjecaj ionskog zracˇenja na polimere
2.5.1 Fizikalni i kemijski procesi u polimerima tijekom zracˇenja ionima
Kao i svaka druga krutina, polimeri sadrzˇe defekte no mnogi polimerski defekti su
jedinstveni za odredenu klasu materijala. Npr. lancˇani krajevi mogu biti prisutni unu-
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Polimer ρ / kg m−3 c / J kg−1 °C−1 Tm / °C Tg / °C
CN 1400 1500 160 55
CR− 39/PADC 1300 2300 100 90
PC 1200 1210 155 150
PE 930 2100 85 −80
PET 1400 1250 260 75
PI 1420 1120 390 385
PMMA 950 1500 160 125
PP 900 1920 160 −10
PS 1060 1400 240 100
PTFE 2200 1170 330 120
PV DF 1800 1120 180 −35
PV C 1300 1000 180 80
PEEK 1320 1340 345 145
Tablica 2.2: Osnovna svojstva polimera koriˇstenih za proucˇavanje ionskih tragova. U
prvom stupcu je naveden naziv polimera od znacˇaja, u drugom prosjecˇna gustoc´a,
u trec´em specificˇni toplinski kapacitet, u cˇetvrtom okvirna temperatura taljenja te u
petom prosjecˇna temperatura staklastog prijelaza.
tar kristala, mozˇe biti presavijanja lanaca unutar kristala (npr. ukopane petlje, eng.
burried loops) ili netocˇna jedinica unutar lanca (npr. PP jedinica unutar PE lanca).
Mozˇemo imati i nepostojanje bocˇnih lanaca (nastajanje radikala) i moguc´u pojavu
dislokacija. Svi navedeni defekti uzrokuju povec´anje jedinicˇne c´elije, specificˇnog vo-
lumena te smanjuju taliˇste. Dodatno, mikropraznine koje su uvijek prisutne kod
polimera u volumenu od 1 do 10−9 vol.%, gustoc´e od 106 do 109cm−3 te promjera sve
do 4 µm. Tipicˇne mikropukotine su 10 do 30 nm te rastu pod utjecajem elektricˇki i
mehanicˇki uzrokovanog stresa.
Fizicˇko starenje polimera uzrokuje smnjenje slobodnog volumena. Kemijsko sta-
renje mu obicˇno prethodi s formacijom R* slobodnih radikala nakon prethodnog
koraka X, npr. X+Ra+b −→ R∗a + R∗b . Slobodni radikali su kemijski vrlo reaktivni i
vode na propagacijsko cijepanje lanaca ili formiranje mrezˇe krizˇno presavijenih la-
naca kroz lancˇane reakcije. Inicijator mozˇe biti uzrokovan toplinski, oksidativni, me-
hanicˇki, preko hidrolize ili uzrokovan apsorpcijom UV ili druge ionizacijske radijacije.
Oksidativni inicijator mogu biti nusproizvodi kod proizvodnje polimera kataliziran
metalnim ionima. Foto oksidaciju mogu uzrokovati i nusprodukti koji apsorbiraju UV
zracˇenje. Reakcija polimera s H+ ili OH−ionima iz disocijacije vode, u luzˇnatom ili
kiselom okruzˇenju, mozˇe formirati ione polimera koji doprinose starenju. Prisutnost
elektricˇnih polja znatno pojacˇava prethodno navedene faktore pogorsˇanja polimera
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zbog omoguc´avanja disocijacije i ionskog transporta koji uzrokuju povec´anje stresa
u materijalu. U ekstremnim slucˇajevima to mozˇe dovesti do elektricˇnog proboja koji
uzrokuje ,,elektricˇna stabla” (eng. electrical trees) ili u slucˇaju prisutnosti vode ,,vo-
dena stabla” (eng. water trees”).
Najcˇesˇc´e koriˇsteni polimeri za ionsko ozracˇivanje su dostupni, medu ostalima, kao
savitljive tanke folije debljine od nekoliko µm pa do nekoliko 100 µm, nekoliko 10
cm do nekoliko m sˇirine te duljine do nekih 100 m. Cˇesto je takoder moguc´e nanijeti
polimer metodom ,,spin coat” na odgovarajuc´i supstrat, npr. silicijske kruzˇne plocˇe
(eng. silicon wafers). Za tu primjenu, polimeri se mogu otopiti u odgovarajuc´em
otapalu kao sˇto je npr. toulen. Kada je proces otapanja spor (npr. za polisilane)
mozˇe se povec´ati toplinom i/ili ultrazvucˇnim tretmanom. Netopljivi zaostaci mogu
se filtrirati ili sedimentirati u centrifugi kako bi se dobile cˇiste otopine. Polimeri
omoguc´uju fleksibilnost, jednostavnu obradu i dobra izolacijska svojstva sˇto ih cˇini
pogodnima za mnoge zadatke. Kod nekih slucˇajeva ista ta svojstva ogranicˇavaju
njihovu daljnju primjenu. Njihovo ozracˇivanje pruzˇa nacˇin za modifikaciju njihovih
svojstava.
2.5.2 Eksperimentalne tehnike za mjerenje ionskih tragova u polimerima
Brojne tehnike su dostupne za mjerenje dimenzija ionskih tragova u polimerima.
Vec´a c´e se tezˇina dati opisu primjene tehnike na polimeru i kako se dolazi do po-
uzdanog rezultata, a manje na samoj instrumentalnoj metodi. U nastavku c´e se na-
vesti samo najvazˇnije koje su ujedno i iskoriˇstene za dobivanje tragova kod nekih
polimera. Spomenute tehnike mozˇe se podijeliti u dvije kategorije. Prva proucˇava
kemijske promijene u meti odnosno cijepanje lanaca, krizˇno povezivanje, nastanak
radikala, nastanak produkata reakcija. U tu kategoriju, medu ostalima, spada in-
fracrvena spektroskopija, Ramanova spektroskopija te jetkanje. Druga kategorija
eksperimentalnih tehnika proucˇava strukturne promjene u polimerskom materijalu,
odnosno promjene u kristalinicˇnosti, nastanak fluktuacija gustoc´e (npr. nastanak
klastera i pora), nastanak faznih kontrasta. U to kategoriju spada, medu ostalima,
diferencijalna skenirajuc´a kalorimetrija, rasprsˇenje X zraka, rasprsˇenje neutronima
i X zrakama pod malim kutem, opticˇka i UV spektoskopija, proucˇavanje vodljivosti
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(konduktometrija), transmisijska elektronska mikroskopija, skenirajuc´a elektronska
mikroskopija, skenirajuc´a tunelirajuc´a mikroskopija te atomska mikroskopija sila.
2.5.3 Infracrvena spektroskopija (IR, FTIR)
Iz IR spektra mozˇe se saznati informacija o tipu i razmjesˇtaju veza i pojavnosti
odredenih funkcionalnih grupa. Metodom izravno opazˇamo energijske razlike medu
molekularnim stanjima. IR spektar je jedinstven za svaku molekulu pa se mozˇe iz
malih pomaka u vrpci zakljucˇiti o odvijanju kemijskih procesa. Svaka molekularna
grupa unutar polimera sadrzˇi karakteristicˇne frekvencije vibracijskih i rotacijskih os-
cilacija koje lezˇe u infracrvenom (IR) i mikrovalnom podrucˇju, respektivno. Ovdje se
ogranicˇavamo na infracrveni spektar od vibracijskih pobudenja. Na slici 2.10 vidimo
kvalitativni prikaz postava, a na slici 2.11 neke tipicˇne spektre.
Slika 2.10: Shema tipicˇnog postava za IR spektroskopiju. Apsorpcija/transmisija se
promatra pod 0° od upadnog zracˇenja. Monokromator se prilagodava infracrvenom
podrucˇju spektra. Prema [7]
Mozˇemo razlikovati daleki, srednji i bliski IR pojas. Srednje podrucˇje 400-4000
cm−1, korenspodira najjednostavnijoj i najjacˇoj vibraciji absorpcijskih frekvencija (,,fun-
damentalnih” frekvencija) organskih molekula koje su IR aktivne. Apsorpcijske vrpce
u bliskom IR pojasu (4000 do 13000 cm−1) su prizvuci i kombinacije apsorpcijskih
pojaseva od fundamentalnih vibracijskih frekvencija i k tome su sˇiri i slabiji.
Mora se razlikovati izmedu vibracija kostura sustava gdje doprinosi cijela mo-
lekula i lokalnih vibracija. Vibracije duzˇ osovine veza opisuju se kao valentne ili
vibracije istezanja, dok se kutne modifikacije pridodaju rotacijskim ili vezujuc´im vi-
bracijama. U istoj grupi vibracija, apsorpcijski maksimum vibracija istezanja je uvijek
viˇsi od deformacijskih vibracija. Opticˇka pobuda vibracija je jedino moguc´a ako se
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simetrija raspodjele naboja u molekuli promijeni, npr. ako imamo elektricˇno polje iz
materijala koje mozˇe interagirati s radijacijom (izborna pravila). Takav oscilirajuc´i
dipol apsorbira iz nadolazec´eg elektromagnetskog zracˇenja samo vlastitu frekvenciju.
Zbog toga molekule s visokom simetrijom sadrzˇe samo nekoliko IR vrpci, jer je dio
vibracija neaktivan zbog izbornih pravila.
Po transmisiji ili refleksiji svjetlosti od polimera uvida se iˇscˇezavanje karakte-
risticˇnih frekvencija u spektrima te oni time postaju pogodni za analizu. Promjene u
intenzitetima IR spektra formacijom ovakvih karakteristicˇnih oscilatornih vrpci po
ozracˇivanju daje informaciju o uniˇstenju starih ili formaciji novih kemijskih veza
i/ili funkcionalnih grupa. Kako su najintenzivnije, vrpce vibracija istezanja su naj-
pogodnije za uvidanje kemijskih promijena. Atmosferski uvjeti prostorije kao sˇto su
kontaminirajuc´e cˇestice, vlazˇnost i osvjetljenje znacˇajno utjecˇu na popunjenost vrpci
unutar polimera. Danas se infracrveni spektri dobivaju uglavnom preko Fourierove
transformacije samog spektra (FTIR) koji se ujedno mogu koristiti i za proucˇavanje
kristalinicˇnosti polimera. Takva spektroskopija pokriva valne duljine od tipicˇno 2000
do 40000 nm, odnosno 250 do 5000 cm−1 s rezolucijom 4 cm−1.
Uobicˇajeno transparentni polimeri mogu se ispitati i refleksijskom i transmisij-
skom geometrijom ukoliko se koristi odgovarajuc´a debljinu materijala. Za analizu
karakteristicˇnih vrpci IR spektra ozracˇenog polimera mjeri se razlika izmedu osnov-
nog inenziteta I i vrsˇnog intenziteta I0. Kako bi se usporedili razlicˇiti sustavi razlika
se noramlizira na neozracˇeni uzorak i tako imamo relativni intenzitet:
Irel = (I − I0)ozracˇ/(I − I0)neozracˇ. (2.21)
Uniˇstenje vrpci nam sugerira vrijednost Irel < 1. Omjer I/I0 je transmisija T :
T = I/I0 = 10
−akd. (2.22)
Apsorpcijski koeficijent ili ,,absorbancija” a je karakteristicˇna konstanta za apsorp-
ciju na odredenoj valnoj duljini te bi trebala biti proporcionalna stupnju kemijske pro-
mijene. Umnozˇak koncentracije k i debljine uzorka d je mjera kolicˇine apsorpcijskih
molekula u uzorku. Prethodna se formula mozˇe zapisati u obliku Beer-Lambertovog
zakona:
A = log10 (I/I0) = log10 (1/T ) = akd. (2.23)
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Slika 2.11: Tipicˇni IR transmisijski spektri nekih vazˇnijih polimera. Transmisija
zracˇenja je dana u ovisnosti o inverzu valne duljine u cm−1. Odozgora prema do-
lje polietilen, polipropilen, polistiren i politetrafluoretilen. Desno su dane kemijske
formule monomera.
2.5.4 Ramanova spektroskopija
Ramanov efekt omoguc´uje prac´enje molekularnih fenomena opticˇkom spektro-
skopijom. Frekvencije molekularnih prijelaza cˇesto lezˇe prenisko u u infracrvenom
podrucˇju. Ramanov efekt fine promjene energije molekula ,,superponira” na ,,os-
novnu energiju” ulaznog fotona i cˇini molekularnu fiziku dostupnom istrazˇivanju
opticˇkim spektrometrima, tj. vidljivoj svjetlosti. Vjerojatnost da se dogodi Ramanov
efekt nije velika (svega 1 na milion fotona ga dozˇivi) te je za brzo snimanje potreban
vrlo intenzivan monokromatski snop poput lasera. Tipicˇna konfiguracija mjernog
postava prikazana je na slici 2.12.
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Slika 2.12: Shema postava za Ramanovu spektroskopiju. Laserski snop pada na uzo-
rak dok se efekt promatra obicˇno pod 90° radi izbjegavanja vrlo intenzivne osnovne
laserske frekvencije. Monokromator propusˇta zracˇenje samo jedne ili uskog pojasa
frekvencija. Detektor (fotomultiplikator) mjeri intenzitet propusˇtene komponente
svjetlosti. Prema [7]
Laserski snop pada na uzorak, a mjeri se opticˇkim spektroskopom postavljenim
okomito na smjer lasera kako bi se izbjegao ulazni snop. Ramanova spektroskopija
mozˇe se koristiti za identifikaciju molekula. Pri prolazu fotona svjetlosti kroz materi-
jal dio energije mozˇe apsorbirati molekula. Infracrveni ili svjetlosni snop frekvencije
ν0 koji prodire u polimer djelomicˇno se odbija istom frekvencijom ν0 (,,Tyndallovo
rasprsˇenje”), djelomicˇno s nizˇom frekvencijom ν0 − νabs ukoliko dio energije fotona
apsorbira molekula (Stokesova linija), a djelomicˇno s frekvencijom ν0 + νabs ukoliko
ulazni foton naide na pobudenu molekulu (antistokesova linija) gdje je νabs ener-
gija koju karateristicˇna polimerska funkcionalna grupa absorbira. Pomaci u frekven-
ciji nazivaju se ,,Raman shifts” i obicˇno se izrazˇavaju u valnim brojevima. Rama-
nove frekvencije su u infracrvenom pojasu. One korespondiraju valentnim i defor-
macijskim oscilacijama karakteristicˇnim za energije vezanja pridruzˇenih polimerskih
grupa. Broj Ramanovih linija je koreliran s prostornom konfiguracijom podrucˇja pod
razmatranjem. Shodno tome, Ramanova spektroskopija omoguc´ava odredivanje pro-
mjena u polimerskoj strukturi nakon ozracˇivanja. Na slici 2.13 vidimo neke tipicˇne
Ramanove spektre.
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Slika 2.13: Tipicˇni Ramanovi apsorpcijski spektri nekih vazˇnijih polimera. Apsorpcija
svjetlosti je dana u ovisnosti o inverzu valne duljine u cm−1. Odozgora prema dolje
polietilen, polistiren, polipropilen i politetrafluoretilen.
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Treba imati na umu prisutnost punila i/ili aditiva unutar polimera koji mogu vo-
diti na pogresˇne vrijednosti za npr. FTIR ili Ramanovu spektroskopiju. Npr., komer-
cijalna silikonska guma uvijek pokazuje iˇscˇezavanje svih funkcionalnih grupa nakon
ozracˇivanja s brzim tesˇkim ionima ili nakon jetkanja. No to ne prikazuje nuzˇno pri-
padnu radiokemiju, to je barem djelomicˇno rezultat povec´anja zasjenjenja analizi-
rane povrsˇine od strane aditiva i punila izlozˇenih polimerskom ionskom sputteringu.
Posljedicˇno, pranje ozracˇenih uzoraka u destiliranoj vodi uklanja te cˇestice i vodi na
djelomicˇnu obnovu originalnog spektra.3
2.5.5 Korisˇtenje jetkanja (eng. etching)
Koncentrirane alkalne otopine na poviˇsenim temperaturama su cˇesto sposobne
reagirati sa specificˇnom polimerskom funkcionalnom grupom koja se potom mozˇe
jednostavno otopiti u, npr. vodi. Sˇto je ova procedura izrazˇenija viˇse se polimera
osˇteti ionskim zracˇenjem te se manifestira formacijom radikala i cijepanjem lanaca.
Nosuprot tome, ako je polimer zracˇenjem podvrgnut krizˇnom vezivanju umjesto ci-
jepanja lanaca bit c´e manje jetkan na toj lokaciji udara nego u okolini. Za slabo
osˇtec´eni polimer s nekoliko medusobno udaljenih mjesta osˇtec´enja, prodiranje sred-
stva za jetkanje u polimer c´e napraviti nekoliko rasˇtrkanih zona novog slobodnog
prostora. Sˇto je jacˇe osˇtec´enje, npr. smanjenjem udaljenosti pojedinacˇnih radikala
povec´ava se vjerojatnost da c´e se novoformirane nanopore medusobno spojiti. Za
dani prag osˇtec´enja, sve novoformirane pore duzˇ duljine traga c´e se spojiti u jedno
kontinuirano podrucˇje, koje se naziva jetkanim tragom. Vanjski utjecaji kao sˇto je
temperatura, atmosfersko stanje, prethodno tretiranje s odredenim tekuc´inama ili
radijacijom mogu promijeniti efikasnost topivosti osˇtec´enih mjesta, pa time smanjiti
(,,ucˇiniti osjetljivijim”, eng ,,sensitisation”) ili povec´ati (,,kalemljenje”) prag jetkanja
traga.
Treba napomenuti da su jetkani tragovi vec´i od klasicˇno mjerenih latentnih tra-
gova, te je prag za jetkanje vec´i od praga za stvaranje latentnog traga. U tom smislu
dimenzije i pragovi jetkanih tragova mogu biti samo gornja granica, odnosno jedino
3Fink D, Kuri G, Yang T (1998), neobjavljen rad
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se ekstrapolacijom na nulto vrijeme jetkanja mogu raditi procjene dimenzija latent-
nih tragova.
2.5.6 Diferencijalna skenirajuc´a kalorimetrija (DSC, eng. Differential scanning
calorimetry)
DSC odreduje potrebnu ili otpusˇtenu toplinu tokom grijanja polimerskog uzorka
preko razlike u toku topline prema analiziranom uzorku. Npr., kada prolazi kroz fazni
prijelaz (npr. iz staklastog u gumeno ili iz krutog u tekuc´e stanje) tokom grijanja na
temperaturi Tph polimer oslobada energiju koja se mozˇe izmjeriti osjetljivim kalori-
metrom. Diferencijacija cˇini ove promjene josˇ izrazˇenijima. DSC se mozˇe takoder
koristiti za proucˇavanje razlika u kristalinicˇnosti. Ako se uzorak polimera zagrijava,
DSC obicˇno mjeri endotermne vrhove zbog kristalizacije, a nakon hladenja pronalaze
se pripadni egzotermni vrhovi. Ionsko ozracˇivanje polimera mijenja mu molekularnu
strukturu, a time i temperature faznog prijelaza. Entalpije taljenja, a time i tempe-
rature taljenja Tm polimera velike molekulske mase ovise o kemijskoj vrsti i struk-
turi, savitljivosti pojedinih lancˇanih molekula te njihovom pakiranju. Savitljivost se
odreduje unutarmolekulskim, a pakiranje medumolekulskim, silama.
U pogledu slozˇenosti faktora koji odreduju Tm, nije posve jednostavno interpre-
tirati DSC rezultate nedvosmisleno. Nasuprot kristala koji sadrzˇe kratke lance, u
slucˇaju makromolekula osnovne lancˇane jedinice su navezane jedna na drugu, sˇto
ogranicˇava broj moguc´ih konformacija po jedinici te se time smanjuje entalpija ta-
ljenja. To smanjenje je izrazˇenije za duzˇe lance. Kao poslijedicu imamo povec´anje
taliˇsta s povec´anjem duljine lanca (npr. povec´anjem molekularne tezˇine Mw).
2.5.7 Rasprsˇenje X zraka (XRD,WAXD-pod velikim kutem)
Slucˇaj prijenosa energije u rasprsˇenju ∆E = 0 zove se elasticˇno rasprsˇenje. Rasprsˇenje
X zraka valne duljine λ s kristala konstante resˇetke d pod kutem Θ opisuje se Brag-
govim pravilom:
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nλ = 2d sinΘ, (2.24)
gdje je n red refleksije X zraka. XRD difrakcijska analiza mozˇe se koristiti i za polu-
kristalinicˇe ili kristalinicˇne polimere. U tom slucˇaju promjene u difrakcijskim spek-
trima X zraka po ozracˇivanju su, pretpostavlja se, zbog uniˇstenja i uneredenja ori-
ginalnih lamelarnih (kristalnih) polimerskih struktura. Povremeno uocˇeni pomaci u
vrhovima X zraka mogu upuc´ivati na nered u kristalnoj strukturi zbog povec´anog
naprezanja, uzrokovanog razlikama u gustoc´i prvotnih i ozracˇenih zona. Sˇirina re-
fleksijskih vrhova X zraka daje informaciju o velicˇini kristala koje se proucˇava.
Prema Debyeu i Scherreru, puna sˇirina na pola visine vrha FWHMD je korelirana




〈L〉 cos(Θ) . (2.25)
Treba imati na umu da FWHMD oznacˇava pola sˇirine ispravljeno s instrumentalnom
sˇirinom FWHMinstr : FWHMD = (FWHM2meas − FWHM2instr)1/2. Ovakva razma-
tranja su od interesa, npr., kada se proucˇava promjene u kristalinicˇnosti ozracˇenog
polimera. Na slici 2.14 vidimo tipicˇne XRD spektre.
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+Slika 2.14: Tipicˇni XRD spektri nekih vazˇnijih polimera u ovisnosti o stupnju krista-
linicˇnosti. Intenzitet je dan u ovisnosti o kutu 2Θ (od 0 do 60°, po 5°). Odozgora
prema dolje imamo polietilen, polipropilen, celuloza i polikarbonat. Vidimo da se
smanjenjem kristalinicˇnosti karakteristicˇni vrhovi sˇire.
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2.5.8 Rasprsˇenje neutrona pod malim i X zraka pod malim/velikim kutem
(SANS i SAXS/WAXS)
Kod eksperimenta koji ukljucˇuje rasprsˇenje, mjeri se intenzitet I(q) rasprsˇene ra-
dijacije, dane s amplitudom A(q) rasprsˇenog vala i pripadnim kompleksnim konjuga-
tom A∗(q):
I(q) = A(q)A∗(q). (2.26)
Za male kuteve, samo promjene u lokalnoj gustoc´i centara rasprsˇenja unutar malog
volumena ulaze u A(q), neovisno o predznaku naboja (Babinetov princip optike).
Ukljucˇivanjem svih centara rasprsˇenja u (2.23) , dobiva se cˇlanove koji opisuju samo-
korelacijsku funkciju i korelacijsku funkciju parova Q(r). Ova poslijednja korelacijska
funkcija posebno je znacˇajna kod pravilnih lokalnih raspodjela centara rasprsˇenja
(npr. klasteri ili tragovi), te vrijedi:
Q(r)  Ncentri rasprsˇenjaFcentri/Fukupno, (2.27)
gdje su Fi povrsˇine poprecˇnih presjeka, a Ni gustoc´e.
Diferencijalni udarni presjek dσ/dΩ, odnosno udio cˇestica (neutrona ili fotona)
rasprsˇenih u dΩ, mozˇe se razdvojiti u faktor rasprsˇenja f i tzv. strukturni faktor S(Q)
koji opisuje uzorak. Za rasprsˇenje fotona na vezanim elektronima, f je frekventno
ovisan f=f(ω0). Za male ω0 (svjetlo) uocˇava se Rayleighovo rasprsˇenje, za srednje
ω0 uocˇava se rezonantno rasprsˇenje, a za visoke ω0 (X zrake) imamo Thompsonovo
rasprsˇenje.
2.5.9 Opticˇka i UV spektroskopija
Ova spektroskopska tehnika ispituje elektronska stanja molekule ili atomskog
klastera, dok Raman i IR spektroskopija prate vibracijska gibanja molekula. Promjene
u elektronskim vezama utjecˇu na elektronske apsorpcijske i florescentne spektre. S
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druge strane, UV-vidljiva spektroskopija ima ogranicˇenu upotrebu u odredivanju vr-
sta i koncentracija u viˇse komponentnim sustavima. Dok je tipicˇni omjer spektarske
sˇirine u odnosu na ukupni frekventni spektar ˜1:400 za IR, on je ˜1:10 u UV-vidljivom
podrucˇju. Shema za opticˇku i UV spektroskopiju vrlo je slicˇna shemi za infracrvenu
spektroskopiju jedino se kao izvor koristi volframova ili deuterijska lampa, respek-
tivno, te je monokromator i detektor prilagoden drukcˇijem podrucˇju rada.
Za svjetlost koja upada okomito na povrsˇinu transparentnog polimer debljine d s
valnom duljinom λ, koeficijent transmisije T i koeficijent refleksije R dani su s:
T = [(1−R)2exp(−4pid/λ)]/[1−R2exp(−8pid/λ)], (2.28)
R = [(1− n)2 + k2]/[(1 + n)2 + k2]. (2.29)
Ovdje je n indeks refrakcije, a k apsorpcijska konstanta. I n i k mogu se dobiti preko
gornjih relacija za T i R, a u svezi su s prijelaznim energijama izmedu vrpci. Iz
apsorpcijske konstante po jedinici duljine mozˇe se izracˇunati opticˇka apsorbancija α
(imaginarni dio ε2(λ) od kompleksnog refrakcijskog indeksa):
α = 4pik/λ. (2.30)
Na slici 2.15 dani su primjeri nekih tipicˇnijih UV spektara.
2.5.10 Proucˇavanje vodljivosti (konduktometrija)
Mnogi neozracˇeni polimeri su izolatori u cˇistim stanjima (eng. pure state), bez
ili sa malo nesparenih spinova. Po ozracˇivanju, uvode se elektronski defekti, postaju
vodljivi kako se obogac´uje ili osiromasˇuje skup elektrona, sˇto znacˇi da se Fermijevi
nivoi pomicˇu iz pripadnih vrpcˇanih procjepa u vodljive vrpce. Razlicˇiti vodljivi meha-
nizni u polimeru mogu se razlikovati uocˇavanjem naponskih i temperaturnih osobi-
tosti. Npr. u slucˇaju ionske vodljivosti, struja se opc´enito smanjuje s vremenom kako
se ioni ne mogu ubaciti ili izvucˇi iz izolatora dovoljno brzo. To ima za poslijedicu
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Slika 2.15: Tipicˇni UV transmisijski spektri nekih vazˇnijih polimera. Transmisija
zracˇenja je dana u ovisnosti o valmoj duljini u nm. Slijeva na desno imamo poli-
etilen, polipropilen, polivinil klorid, polistiren i polietilen tereftalat. [8]
moguc´nost gomilanja unutarnjih prostornih naboja s pripadnim velikim unutarnjim
poljima. Od specijalne vazˇnosti za ozracˇene polimere je skocˇna (eng. hopping) vod-
ljivost. Postoji nekoliko razvijenih modela koji opisuju taj proces (skakanje stalnim
ili promijenjivim dosegom).
2.5.11 Transmisijska elektronska mikroskopija
Transmisijska elektronska mikroskopija (TEM, eng. transmission electron micros-
copy) zamjenjuje vidljivu svjetlost kao observacijski medij s elektronima. Time se
postizˇe znatno bolja razolucija slike reda sve do 0.1 nm cˇime se mogu razlucˇiti cˇak
i individualni atomi. Uzorci moraju biti dovoljno tanki (100 nm do 1 µm) kako bi
se omoguc´ilo elektronima (tipicˇno 100 keV do nesˇto MeV energije) da produ kroz
njih. S druge strane, uzorci moraju biti dovoljno stabilni kako bi podnijeli udar
energetskih elektrona dovoljno dugo kako bi se moglo izvrsˇiti mjerenje. To cˇesto
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predstavlja velik problem za polimere i nije ih uvijek moguc´e izbjec´i, npr. naparava-
njem sloja metala, impregnacijom s tesˇkim elementima (npr. osmijeve soli) u cilju
povec´anja kontrasta slike. Posljedica toga je relativno rijetko koriˇstenje TEM-a u kod
proucˇavanja ozracˇenih polimera. Na slici 2.16 dana je shema TEM mikroskopa. Na













Slika 2.16: Shema TEM mikroskopa. Od gore prema dolje imamo: elektronski top,
otvor kondenzera, otvor objektiva, ulaz za uzorak, lec´e objektiva, difrakcijske lec´e,
srednji otvor, srednje lec´e, lec´e projektora, binokular, florescentni zastor, sustav za
snimanje slike. [9]
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Slika 2.17: TEM slika prikazuje RuO4 obojenu morfologiju djelomicˇno izmjesˇanog
izotakticˇkog polipropilena (matrix) i nekristalnog polietilen kopolimera. Unutar po-
lietilenskih faza vidljive su pojedinacˇne i-PP lamele. U donjem desnom kutu slike je
dana skala. [10]
2.5.12 Skenirajuc´a elektronska mikroskopija
Skenirajuc´a elektronska mikroskopija (SEM, eng. scanning electron microscopy)
izbjegava problem tankih uzoraka, za razliku od transmisijske mikroskopije, koriˇstenjem
elektrona rasprsˇenih od uzoraka unazad. Ovaj pristup definira rezoluciju slike (tipicˇno
10 nm) rasprsˇenjem elektrona unutar uzorka, koja se povec´ava povec´anjem ener-
gije elektrona. Velika energija elektrona omoguc´ava dobivanje slika i od podrucˇja
ispod povrsˇine, no pri smanjenoj rezoluciji. Umjesto koriˇsenja unazad rasprsˇenih
elektrona, mogu se promatrati i sekundarni elektroni emitirani s uzorka po udaru
elektrona. Dok se kod TEM-a slike dobivaju elekto-opticˇkim putem, kod SEM-a se
dobivaju sekvencijalnom analizom tocˇku po tocˇku nakon sˇto elektronska zraka pro-
skenira povrsˇinu uzorka. Jako izolirajuc´i polimeri se mogu ovom metodom napos-
lijetku toliko nabiti pod udarom elektronske zrake da je svako daljnje oslikavanje
nemoguc´e. U tom slucˇaju biti c´e najvjerojatnije potrebno deponirati sloj metala. Na

















Slika 2.18: SEM analizirajuc´i mikroskopa. Odozgora prema dolje imamo elektronski
top, elektronski snop, prvi kondenzor, otvor za prskanje, drugi kondenzor, detektor X
zraka, skretne zavojnice, lec´e objektiva, zadnji otvor lec´e, detektor unazad rasprsˇenih
elektrona, uzorak, drugi detektor elektrona te vakuumska pumpa. [11]
Slika 2.19: Komad kristaliziranog polistirenskog lateksa promatranog SEM metodom.
Vidimo takozvane lateks perle (,,latex beads”) poslozˇene u kristalnu strukturu. U
donjem dijelu slike je dana skala. [10]
50
2.5.13 Skenirajuc´a tunelirajuc´a mikroskopija (STM)
Skenirajuc´a tunelirajuc´a mikroskopija (STM, eng. scanning tunneling micros-
copy) koristi naosˇtreni vodljivi vrh s razlikom napona izmedu vrha i vodljive povrsˇine.
Na udaljenostima od oko 1 nm od uzorka elektroni pocˇnu tunelirati izmedu povrsˇine
i vrha. Rezultantna tunelirajuc´a struja mijenja se s razmakom vrh od vrha, te je to
signal koji stvara STM sliku. STM mozˇe operirati u modovima stalne visine i stalne
struje. STM je veoma osjetljiv na elektronsku strukturu uzoraka. U pravilu se koristi
za vodljive povrsˇine, a to ukljucˇuje i polimere koji se ponasˇaju kao poluvodicˇi (npr.
poluvodljivi pi konjugirani polimeri). Metoda nije koriˇstena unutar opsega ovog rada
no navodi se zbog svoje vazˇnosti. Primjer postava za mjerenje dan je na slici 2.20, a
slika polimera na slici 2.21.
Slika 2.20: STM postav za mjerenje. Glavne komponente STM-a ukljucˇuju skenirajuc´i
vrh, piezoelektricˇno kontrolirana visinska i x,y lokacija, gruba kontrola udaljenosti
vrha od uzorka, izolacija vibracija i racˇunalo. [12]
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Slika 2.21: STM slika grafita. Vidi se atomska struktura. Uz rubove slike je dana
skala. [10]
2.5.14 Atomska mikroskopija sila (AFM, a koristi i naziv SFM, eng. scanning
force microscopy)
Atomska mikroskopija sila (AFM, eng. atomic force microscopy) ispituje povrsˇinu
uzorka s osˇtrim vrhom smjesˇtenim na slobodnom kraju nosacˇa. Sile izmedu vrha
i povrsˇine uzorka uzrokuju da se nosacˇ savija ili otklanja. To se mjeri dok je vrh
skeniran iznad povrsˇine uzorka ili je uzorak skeniran ispod vrha. Iz mape odmaka
nosacˇa rekonstruira se povrsˇinska topografija. Mogu se ispitivati i izolatori i vodicˇi.











Slika 2.22: AFM postav za mjerenje. Nosacˇ se odmicˇe od povrsˇine kako prelazi preko
nje pa se pomaci lasera mogu biljezˇiti preko fotodiode. [13]
Slika 2.23: AFM slika polipropilena. Vide se lamele unutar strukture. U donjem
dijelu slike je dana skala. [10]
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2.6 Analiticˇki model termalnog vala
Kod ovog modela se razmatra samo atomski sustav. Pretpostavljamo da radijalna
distribucija temperature u tragu ima Gaussovu raspodjelu. Cilindricˇna geometrija
ionskog traga (termalnog vala) se reducira na 2D problem:






gdje je ∆T - porast temperature na udaljenosti r od putanje projektila, a(t) - vre-
menska evolucija (proporcionalno FWHM termalnog vala). Pocˇetni uvjet (t=0) je
trenunak kada imamo maksimalnu temperaturu u ishodiˇstu (r=0) prilikom prijenosa
energije s elektrona na atome. Ne razmatra se elektronsko pobudenje, ono se zbiva
prije pocˇetnog trenutka modela, razmatra se samo relaksacija termalnog vala. Pro-
ces prijenosa energije odvija se na pikosekundnoj skali sˇto je puno krac´e od vremena
relaksacije vala pa, u ovom slucˇaju, ne igra ulogu. Karakteristicˇna inicijalna sˇirina
termalnog vala u kristalinicˇnim izolatorima iznosi a(t=0)=a0= 4.5 nm neovisno o
energiji projektila u rasponu 0.02-20 MeV/u (nekad i vec´i raspon). Primjenjivost
ovog parametra za sˇirok spektar materijala upuc´uje nas da termalna vodljivost ne
doprinosi u pocˇetnoj fazi nastanka traga odnosno prijenos energije na atomski sustav
prethodi sˇirenju termalnog vala. Prema zakonu ocˇuvanja energije imamo:
gSe = ρcQ+ ρpiR
2L ' ρcQ, (2.32)
gdje je Q - amplituda termalnog vala, g - dio deponirane energije (izgubljene kineticˇke
energije) od brzog tesˇkog iona koji prijede na atomski sustav te rezultira njegovim
grijanjem, c - specificˇni toplinski kapacitet materijala (prema Dulong-Petit ili Kopp-
Neumann), ρ- gustoc´a materijala.
Latentna toplina L za rastaljivanje cilindra radijusa R se ne uzima u obzir jer pro-
laskom SHI materijal je jako ioniziran, nema viˇse veza medu atomima na koje bi tre-
balo trositi energiju da se razrusˇe. Dakle, ne zanemaruje se (kao neka aproksimacija),
nego se eksperimentalno pokazalo da ne ulazi u jdbu. na taj nacin. Brzinu projektila
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uzimamo u obzir variranjem faktora g. Za male brzine (E ≤ 2MeV/u) iznosi 0.4,
za velike brzine (E ≥ 8MeV/u) 0.17 dok se za srednje brzine (2MeV/u ≤ E ≤
8MeV/u) kontuirano mijenja izmedu datih rubnih vrijednosti. Iz toga zakljucˇujemo
da je mnogo tezˇe dobiti trag na velikim brzinama kako c´e prag biti 2.35 (0.4/0.17)
puta vec´i nego kod malih. Takoder, imat c´emo isti parametar a0 neovisno o vrsti
projektila, samo c´e zaustavne moc´i biti razlicˇite.
Radijus ionskog traga se odreduje najvec´im radijusom rastaljene tvari kako amorfna
struktura nastaje brzim hladenjem taljevine, a disipacija topline sˇirenjem vala sman-





















gdje je e - Eulerov broj, Set - prag za formiranje ionskog traga izrazˇen u zaustavnoj
moc´i. Iz izvoda prethodnih relacija mozˇe se vidjeti da je radijus za male vrijednosti
Se najvec´i u t=0 (2.33) dok se podrucˇje taline sˇiri tijekom hladenja za velike vrijed-
nosti Se (2.34). Zadnju relaciju dobivamo iz (2.31) i (2.32) uvrsˇtavanjem r=0 i t=0
i ∆Tm za minimalni porast temperature za ostvarivanje taljenja materijala. Ukupno
gledano, pretpostavkom da su fenomenolosˇki parametri a0 i g poznati i konstantni
i poznavajuc´i osnovne osobine materijala (gustoc´a, specificˇni toplinski kapacit, tem-
peratura taliˇsta) imamo dovoljnu sliku da bi pouzdano doznali dimenziju tragova.
Jednostavnost ovog modela svakako je njegova velika prednost.
2.6.1 Izvod modela termalnog vala
Pretpostavka modela je termalni val Gausijanskog oblika (2.31):





a2t (t) , (2.36)
, a ukupna energija termalnog vala prikazuje se kroz Q faktor odreden iz dijela















a2 · 2rpi dr = ρcQ. (2.37)
Kako se najviˇsa temperatura postizˇe u r=0 i t=0, prag za stvaranje traga (2.35) dobije
se iz gornje dvije jednadzˇbe zahtjevom da pocˇetni porast temperature u srediˇstu traga
dosegne temperaturu ∆Tm Latentna toplina se ne uzima u obzir, kako je objasˇnjeno





Da bi se odredio radijus ionskog traga potrebno je poznavati najvec´i radijus rastaljene
tvari za trajanja termalnog vala. Vremenska evolucija termalnog vala sadrzˇana je u
parametru at koji je odreden termalnom vodljivosˇc´u materijala. Kako za odrediti
radijus ionskog traga nije potrebno poznavati trajanje termalnog vala, dovoljno je da
imamo implicitno sadrzˇanu informaciju o vremenu u parametru at.


























Najvec´u vrijednost r1 do koje se sˇiri porast temperature ∆T1 izracˇuna se deriviranjem






Uvrsˇtavanjem prethodne relacije u (2.37) dobivamo maksimalni radijus do kojeg se









Kako je prema pretpostavci modela t1 ≥ t0, a time i a1 ≥ a0, iz (2.41) slijedi da
postoji granica na r0 = a0. Za r0 ≥ a0, tj. tamo gdje je u t=0 porast temperature
(2.36) manji od Q
epia2(0)
, prolaskom termalnog vala temperatura najprije raste a potom
pada. Nasuprot tome, za r0 < a0 najviˇsa temperatura se postizˇe u pocˇetnom trenutku
te se potom smanjuje. Uvodec´i temeperaturu taliˇsta kako kriterij za formiranje traga,
vidi se, da ako se taljevina nalazi unutar podrucˇja R < a0 onda je i radijus traga
definiran s R u t=0 jer se prolaskom vremena radijus unutar kojeg je postignuta
temperatura taliˇsta smanjuje. S druge strane, ako se taljevina nalazi unutar podrucˇja
R > a0onda se prolaskom vremena sˇiri do maksimalnog radijusa odredenog s (2.42).
Potrebno je josˇ uspostaviti vezu s jednadzˇbama za opis evolucije ionskog traga
(2.33) i (2.34). Promatraju se dva granicˇna slucˇaja, kada je rastaljeno podrucˇje



















































cˇime je dokazano (2.34).
2.6.2 Primjena ATSM na izolatore
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Brojni eksperimenti svjedocˇe da su iznad odredene granicˇne vrijednosti elektron-
ske zaustavne moc´i Set brzi tesˇki ioni u moguc´nosti amorfizirati kristalinicˇne izo-
latore. Zbog velikog Se elektroni oko ionske putanje su znacˇajno pobudeni. Kao
rezultat elektron-fonon interakcije dio ove energije pobudenja prenosi se na atome u
blizini putanje. Numericˇkim izracˇunima mozˇe se pokazati da takva energija mozˇe
biti dostatna povisiti temperaturu kristalne resˇetke i iznad taliˇsta. Kod izolatora
povec´anje temerature ∆T je ogranicˇeno na mali cilindar duzˇ putanje te traje reda
10−12 − 10−11 s ovisno o radijusu cilindra i termalnoj difuzivnosti mete. Ovaj kratki
vremenski interval je dostatan da uniˇsti resˇetku i mozˇe se formirati amorfno stanje
kao rezultat naglog hladenja. Pretpostavlja se da takav mehanizam nastupa za vri-
jeme nastajanja amorfnih tragova u izolatorima duzˇ putanja brzih tesˇkih iona.
Eksperimenti pokazuju razlicˇito ponasˇanje izolatora na ione male i velike brzine.
Za brze ione (E ≥ 7.6MeV/nukeonu) g=0.17, a(0)=4.5 nm i to je uniformno za sve
dosad proucˇavane izolatorske materijale. To znacˇi da je pocˇetna raspodjela tempera-
ture kod termalnog vala karakterizirana istom sˇirinom gausijana kod svih izolatora i
da se kod razlicˇitih materijala najviˇsa temperatura vala mijenja s (ρc)−1 za dani Se.
Ovo uniformno ponasˇanje je vezano osnovnim svojstvima izolatorskog stanja tvari.
Kod niskih brzina (E ≤ 2.2MeV/nukleonu) analiza je pokazala da efikasnost depo-
zicije energije raste na g=0.35-0.4 sˇto vodi na znatno vec´e tragove nego kod brzih
iona za isti Se. Ova pojava nazivaju se ,,velocity efect”. U nastavku se prikazuju dvije
Szenesove analize gdje imamo jednu analizu samo za brze ione (Slika 2.24), a drugu
za spore (Slika 2.25).
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Slika 2.24: Analiza razlicˇitih izolatora za brze ione. Na gornjoj slici se vidi ovisnost
velicine traga o elektronskoj zaustavnoj moc´i. Donja slika pokazuje kako Set ovisi
linearno o toplinskim parametrima materijala, umnosˇku specificˇnog toplinskog ka-
paciteta, latentne topline taljenja i razlike temperature taljenja.Iz nagiba pravca m
vidi se relativno dobro slaganje s pretpostavkama modela za brze ione. [14]
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Slika 2.25: Analiza razlicˇitih izolatora za spore ione. Na gornjoj slici se vidi ovisnost
velicine traga o elektronskoj zaustavnoj moc´i. Donja slika pokazuje kako Set ovisi
linearno o toplinskim parametrima materijala, umnosˇku specificˇnog toplinskog ka-
paciteta, latentne topline taljenja i razlike temperature taljenja. Iz nagiba pravca vidi
se dobro slaganje s pretpostavkama modela za spore ione. [15]
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Osim koriˇstenja vec´ danih parametara g i a0 za brze i spore i usporedivanjem s
eksperimentalnim podacima mozˇemo ih odrediti i eksperimentalno. Parametar a0
mozˇemo dobiti linearizacijom logaritamskog rezˇima u 2.31 i prilagodbom na odgo-
varajuc´i dio podatka, dok se parametar g dobiva iz linearnog dijela podataka pomoc´u
ovisnosti koja se izvodi uvrsˇtavanjem 2.33 u 2.32. Proceduru treba sprovesti posebno
za brze, a posebno za spore ione.
2.6.3 Primjena ATSM na poluvodicˇe
Sve do sad, ,,velocity efect” (VE) iz prethodnog odjeljka uocˇen je kod svih iz-
olatora osim CaF2 gdje radijusi tragova nisu razdvojeni u skladu s brzinama pro-
jektila [73]. Dok postoji mnogo dostupnih podataka o izolatorima, znatno manje
je objavljeno o poluvodicˇima. Nalazi se da je VE kod poluvodicˇa dosta malen, od-
nosno da su parametri prijenosa energije g ≈ 0.18–0.22 za spore te g ≈ 0.15–0.17
za brze tesˇke ione, dok je parametar a0 ≈ 11nm [16]. Parametar a0 ovisi o ener-
giji procjepa izmedu vrpci (,,bandgap”) poluvodicˇa i to vidimo za neke poluvodicˇe
na slici 2.26 [16]. Za vrijednost parametra g≈ 0.17 Szenes tvrdi da je poslijedica
cˇistog termalnog vala, a da bi za vrijednost g = 0.4, sˇto je slucˇaj kod izolatora za
spore ione, u igru usˇla dodatno i tzv. Coulombova eksplozija (eng. Coulomb explo-
sion) [74]. Inacˇe, Coulombova eksplozija je mehanizam vezivanja elektronske ener-
gije pobudenja iz jakih elektromagnetskih polja na atomsko gibanje. Coulombovo
odbijanje cˇestica istog elektricˇnog nabojnog stanja mozˇe nadvladati veze koje drzˇe
krutinu kompaktnom. VE nije pronaden kod visokotemperaturnih poluvodicˇa [74].
Slicˇno se ponasˇanje ocˇekuje i kod metala [74].
61
Slika 2.26: Veza parametra a0 o inverzu korijena energetskog procijepa materijala.
Vidi se priblizˇno linearna ovisnost. Inicijalna vrijednost na x osi je 4.5 nm sˇto je slucˇaj
kod izolatora. [16]
2.6.4 Primjena ATSM na polimere
Polimeri su zasebna grupa izolatora te je kod njih uocˇena moguc´nost pojave VE.
Oni su vrlo osjetljivi na zracˇenje, te im je prag za formaciju defekata vrlo nisko.
Eksperimenti su dosad pokazali da se polukristalinicˇni polimeri amorfiziraju kada se
ozracˇe prikladnim ionima. U ovom slucˇaju amorfizacija ne znacˇi da atom nuzˇno na-
pusti mjesto resˇetke. Kod polukristalinicˇnih polimera dugacˇki molekulski lanci bivaju
osˇtec´eni, ali ne i potpuno uniˇsteni udarom iona. Lokalna energijska depozicija akti-
vira gibanje molekulskih lanaca pa atomi mogu napustiti mjesto u kristalnoj resˇetci,
no susjedna mjesta u nizu lanca ostaju djelomicˇno sacˇuvana. Neka od eksperime-
nata od Szenesa [17, 18] govore nam da bi model termalnog vala trebao vrijediti
barem u nekim slucˇajevima. Kada vrijedi potrebno je uzeti vrijednost a0 > 4.5nm.
Povec´ana vrijednost tog parametra uzrokovana je smanjenjem elektricˇnog otpora tije-
kom ozracˇivanja. Dodatno, u tom slucˇaju valjanosti model ispravno predvida tempe-
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raturnu ovisnost formacije tragova odnosno povec´anje elektronske zaustavne moc´i
Setu polimeru kod smanjenja temperature ozracˇivanja [17, 18]. Na slikama 2.27 i
2.28 vidimo mjerenja obavljena na PVDF i PET [17,18].
Slika 2.27: Tragovi u polimeru PVDF u ovisnosti o elektronskoj zaustavnoj moc´i.
Primjenjene su razne tehnike: Red su mjerenja vodljivosti, Res su rasprsˇenja X zraka
pod malim kutem (SAXS), a Rex rasprsˇenja X zraka pod velikim kutem (WAXS).
Iscrtkana linija daje teorijsko predvidanje nagiba. [17]
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Slika 2.28: Tragovi u polimeru PET u ovisnosti o elektronskoj zaustavnoj moc´i. Pri-
mjenjene su razne tehnike kao sˇto je prikazano na legendi te je dana teorijska prila-
godba. [18]
2.6.5 Otvorena pitanja i motivacija
Ozracˇivanje tesˇkim ionima mozˇe inducirati tragove kod izolatora i poluvodicˇa.
Formacija tragova ima posebne osobine kod poluvodicˇa s anizotropnim transportnim
svojstvima. Kod jednog takvog poluvodicˇa, GeS, Szenes [19] je otkrio da se VE mije-
nja s Se dok je specificˇna energija projektila E ≈ konstantno. Ovaj efekt dotad nije
bio pronaden niti kod jednog drugog materijala. Javio se za Se < 20 keV/nm gdje se
VE smanjuje i nestaje, iako Se > 20 keV/nm pokazuje jasno definiran VE. Vidi slika
2.29. U takvom rezˇimu iˇscˇeznuc´a VE-a dolazi do preklapanja radijusa tragova u ovis-
nosti o elektronskoj zaustavnoj moc´i za brze i spore ione. Iznad prethodno navedene
granicˇne vrijednosti imamo, sukladno modelu termalnog vala, jasno izdvojene linije
brzih i sporih iona. Ova pojava se pripisuje kombinaciji poluvodljivih i izolatorskih
svojstava materijala GeS. Objasˇnjenje ovakvog anomalnog VE dano je preko Coulom-
64
bovog mehanizma eksplozije. Ovime se naznacˇuje da VE nije obavezno prisutan kod
ozracˇivanja kako se do sada mislilo.
Kod polimera je situacija takoder nerazrijesˇena zbog vrlo malog broja mjerenja.
Osim vec´ navedenih cˇlanaka primjene modela analiticˇkog termalnog vala kod po-
limera od Szenesa postoji josˇ jedan autor Sun [20–22] koji je primjenio analiticˇki
model termalnog vala na PI i PC. Autor je nasˇao kvantitativnu slicˇnost svojih rezul-
tata sa Szenesom za PC gdje je a2(0) = 53nm2 te Set = 2.35 keV/nm [20, 22] , a za
PI kvalitativnu slicˇnost [21] . Postoji takoder naznaka za anomalni VE [19].
Dodatan izazov predstavlja procjena kako dimenzije mjerenih tragova ovise o
tehnikama mjerenja. Iz dostupnih cˇlanaka [17, 18, 20, 23] mozˇe se zakljucˇiti da
najvec´e vrijednosti daju tehnike mjerenja vodljivosti te odmah do njih tehnike jet-
kanja. Potom slijede spektroskopske tehnike (FTIR, Raman), mikroskopske tehnike
poput TEM mikroskopije, difrakcijske tehnike (XRD,WAXD) te naposlijetku tehnike
koje ukljucˇuju rasprsˇenja (SANS,SAXS). Sva ova diskusija samo je ogledna i treba
sprovesti josˇ dosta ispitivanja kako bi se dosˇlo do pouzdanih zakljucˇaka.
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Slika 2.29: Poluvodicˇ GeS je proucˇavan TEM metodom. Dana je ovisnost tragova o
elektronskoj zaustavnoj moc´i za brze i spore tesˇke ione. U granici male zaustavne
moc´i ≈ 20 keV/nm gubi se velocity efekt pa imamo slicˇno ponasˇanje tragova za brze
i spore ione. Dvije crvene linija prestavljaju trend analiticˇkog modela termalnog
vala za brze i spore ione kao kod izolatora. Iscrtkana i tocˇkasta linija predstavljaju
prilagodbu modela s podacima g = 0.24, a(0) = 11.4nm te g = 0.17/3, a(0) = 4.5nm,
respektivno. [19]
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3 Rezultati i diskusija
Za analizu su koriˇsteni dostupni podaci unutar baze podataka ,,Web of Science”
[1] pri cˇemu se je proucˇilo utjecaj velicˇine tragova o elektronskoj zaustavnoj moc´i
kod nekih od najcˇesˇc´ih i najdostupnijih polimera. Tako opsezˇan pothvat trebalo je
nekako ogranicˇiti. Uvjet kojim se je ogranicˇilo istrazˇivanje su cˇlanci unutar baze
koji su osim naziva konkretnog polimera, kratice naziva polimera ili grupnog naziva
,,polimer” sadzˇavali ,,ion track” i/ili ,,swift heavy ion” odnosno ionske tragove ili
brze tesˇke ione kao dodatne kljucˇne rijecˇi. Praksa je pokazala da je kljucˇna rijecˇ
,,ion track” najcˇesˇc´e dostatna. U grupi ovih najvazˇnijih polimera nasˇli su se: CN,
CR-39 ili PADC, PC, PE, PEEK, PET, PI, PMMA, PP, PS, PTFE, PVC i PVDF. Kod svih
nabrojanih polimera osim CN, PEEK i PVC pronaden je dostatan broj podataka o
latentnim tragovima uzrokovan brzim tesˇkim ionima.
U nastavku c´e se prezentirati prikupljeni podaci te prodiskutirati kljucˇne stvari
oko analize i konkretnih rezultata za svaki polimer. U dodatku A prikazana je meto-
dologija izracˇunavanja dimenzija tragova iz eksperimentalnih mjerenja na primjeru
poliimida. [75] Specijalno, za svaki polimer navele su se izracˇunate vrijednosti praga
za nastanak tragova Set za brze i spore ione koristec´i Szenesov ATSM i primjenjujuc´i
vrijednosti iz tablice 2.2. Dodatno, u nekim slucˇajevima je bilo dovoljno eksperimen-
talnih podataka za prilagodbe iz kojih se je mogla dobiti eksperimentalna vrijednost
praga za nastanak tragova Set s pripadnim parametrima g i a(0) te tako direktno
usporediti s izracˇunatim vrijednostima kod kojih su se koristile Szenesove vrijednosti
parametara g i a(0).
3.1 CR-39 ili PADC
Primjer analize provedene kod dobivanja tragova za ovaj polimer dana je na sli-
kama 3.1-3.3. Koriˇsten je CR-39 od proizvodacˇa BARYOTRAK (Fukuvi Chemical Ltd.,
Japan) debljine 950 µm. Uzorak je dobiven iz procˇiˇsc´enih monomera sa stupnjem
cˇistoc´e vec´im od 99.9 %. Gama ozracˇivanje sprovedeno je na Scientific and Industrial
Research, Sveucˇiliˇste Osaka. Ozracˇivanje tesˇkim ionima O 8.6 MeV, Ne 18.8 MeV, Si
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27 MeV, Ar 35 MeV i Fe 80 MeV obavljeno je na HIMAC, NIRS, Japan. Za dio analize
koji ukljucˇuje UV-vidljive spektre doze variraju od 1010 do 1013 iona/cm2, ovisno o
vrsti iona. Absorbancija spektara odredena je klasicˇnim spektrometrom (SHIMADZU
Corp., model UV-1600PC) nekoliko dana po ozracˇivanju. [24]
Rezultati prikupljeni iz ovog i drugih cˇlanaka za ovaj polimer dani su na slici
3.4. [24–26] Uocˇeno je dobro slaganje sa Szenesovim analiticˇkim modelom termal-
nog vala. Imamo vec´a odstupanja za vec´e vrijednosti elektronske zaustavne moc´i s
tim da se svi ioni ponasˇaju kao brzi. Koriˇstene eksperimentalne tehinike u prosjeku
daju razlicˇite rezultate s tim da su se u nedostatku boljih podataka za brze uzeli sred-
nje brzi ioni. Za spore ione nije bilo dovoljno eksperimentalnih podataka. Tragovi
izmjereni tehnikom UV daju nesˇto manje tragove od AFM-a, uz napomenu da se sred-
nje brzi i spori ioni ponasˇaju kao brzi. Vidi se opc´i linearni trend povec´anja vrijednosti
kvadrata radijusa traga o elektronskoj zaustavnoj moc´i. Iz primjene Szenesova ATSM
modela dobilo se je Set ≈ 237 keV/µm za spore ione te Set ≈ 559 keV/µm za brze
ione. Eksperimentalnom prilagodbom na podatke za brze ione dobiveno je slijedec´e:
Set ≈ 902 keV/µm, gdje je g = 0.13± 0.03, a a(0) = 5± 1nm sˇto je blizu Szenesovim
vrijednostima za brze tesˇke ione g=0.17 i a(0)=4.5 nm (Slika 3.4).
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Slika 3.1: UV-vidljivi spektar za CR-39/PADC izlozˇen zracˇenju 18.8 MeV iona Ne.
Vidimo da apsorbancija univerzalno raste s primijenjenom dozom zracˇenja. [24]
Slika 3.2: Promjene u apsorbanciji CR-39/PADC ozracˇenog s 18.8 MeV iona Ne za
prvi (240 nm) i drugi (280 nm) vrh. Vidimo za vec´e doze zracˇenja saturaciju apsorp-
cije vrha od 240 nm koji se priblizˇava vrhu od 280 nm. [24]
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Slika 3.3: Odnos radijusa jezgre tragova i elektronske zaustavne moc´i dobiven UV
metodom iz prethodne analize. U gornjem lijevom kutu je dana autorova eksperi-
mentalna prilagodba na podatke. [24]
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Slika 3.4: Eksperimentalni podaci za CR-39/PADC dobiveni iz vec´eg broja cˇlanaka.
Na grafu je osim mjerenja razlicˇitim metodama dan i Szenesov model za brze (brzi-
teor) i spore (spori-teor) tesˇke ione te vlastita eksperimentalna prilagodba (brzi-exp)
na podatke za brze ione. [24–26]
3.2 PC
Primjer analize provedene kod dobivanja tragova za ovaj polimer dana je na sli-
kama 3.5-3.6. Koriˇsten je komercijalno dostupan PC 1.2 g/cm3 debljine 10 i 30 µm
(Makrofol) od proizvodacˇa Bayer Material Science AG. Uzorci su ozracˇivani na Uni-
versal Linear Accelerator (UNILAC) pri GSI Helmholtz Centre for Heavy Ion Research,
Darmstadt, Njemacˇka s 8.4 i 11.4 MeV/u Au (atomska masa 197u, ukupna kineticˇka
energija 1.7 i 2.2 GeV) ionima s dozama izmedu 1010 i 1012 iona/cm2. Promjer ion-
skih tragova odreden je SAXS tehnikom. Mjerenja su sprovedena na SAXS/WAXS
beamline of the Australian Synchrotron in Melbourne, Australija. Koriˇstene su 12
keV X-zrake i velicˇina snopa od 0.04 mm2. Slike su prikupljane sa Pilatus 1 M detek-
torom s fokalnom duljinom kamere od 1.6 m. [27]
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Rezultati prikupljeni iz ovog i drugih cˇlanaka za ovaj polimer dani su na slici
3.7. [27–33] Uocˇeno je djelomicˇno slaganje sa Szenesovim analiticˇkim modelom
termalnog vala. Imamo vec´a odstupanja za vec´e vrijednosti elektronske zaustavne
moc´i, a posebno za SEM tehniku. Koriˇstene eksperimentalne tehinike u prosjeku
daju razlicˇite rezultate. Najmanje tragove daju SAXS i GAS FLOW metoda (mjere-
nje toka plina). Nesˇto vec´e tragove mjerenje vodljivosti i EDX (energy-dispersive
X-ray spectroscopy)-TEM metoda uz napomenu da se spori i srednje brzi ioni mjereni
konduktometrijskom metodom ponasˇaju kao brzi. SEM metoda daje najvec´e tragove.
Kod nje se brzi ioni ponasˇaju kao spori uz znatna odstupanja jednog mjerenja cˇak i od
vrijednosti za spore ione pa se takvo mjerenje u okviru ovog modela odbacuje. Vidi
se opc´i trend povec´anja radijusa traga o elektronskoj zaustavnoj moc´i. Iz primjene
Szenesova ATSM modela dobilo se je Set ≈ 187 keV/µm za spore ione te Set ≈ 441
keV/µm za brze ione (Slika 3.7).
Slika 3.5: SAXS krivulje ovisnosti intenziteta rasprsˇenja o valnom broju u PC za
razlicˇite doze zracˇenja te pripadne teorijske prilagodbe (pune linije). Vidimo do-
bro slaganje teorije i izmjerenih podataka. Koriˇsteni ion je 1.7 GeV Au. Strelica
oznacˇava smjer pomaka oscilacije prema manjim vrijednostima valnog broja za vec´e
doze zracˇenja. Ocˇekovano, vidi se univerzalni porast doprinosa rasprsˇenja za vec´e
primijenjene doze zracˇenja. [27]
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Slika 3.6: Prosjecˇni radijusi tragova (gore) te polidisperzivnost radijusa (dolje) u
ovisnosti o dozi zracˇenja dobiveni analizom iz prethodnog grafa. Vidi se porast
velicˇine tragova u srednjem podrucˇju doze uz saturaciju za vec´e vrijednosti te posto-
jenja pocˇetne granicˇne vrijednosti do koje je trag priblizˇno konstantan. Vidimo i opc´i
trend povec´anja polidisperzivnosti traga uz saturaciju za vec´e vrijednosti. [27]
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Slika 3.7: Eksperimentalni podaci za PC dobiveni iz vec´eg broja cˇlanaka. Na grafu je
osim mjerenja razlicˇitim metodama dan i Szenesov model za brze (brzi-teor) i spore
(spori-teor) tesˇke ione. [27–33]
3.3 PE
Primjer analize provedene kod dobivanja tragova za ovaj polimer dana je na sli-
kama 3.8-3.9. Koriˇsteni je komercijalni PE niske gustoc´e, debljine 50 µm bez punila
i plastifikatora. PE je sadrzˇavao N-fenilnaptinamin-1 kao antioksidant. PE je je tre-
tiran u kontinuiranom rezˇimu u ionskom pojacˇalu snopa ILU-3 (Kurchilov Institute,
Rusija) s dusˇicˇnim ionima energije 20 keV i doze izmedu 1013 i 1016 iona/cm2. Ske-
niranje snopa frekvencijom od 10 Hz osiguralo je homogenost gustoc´e struje snopa.
Pregrijavanje uzorka sprijecˇilo se hladenjem nosacˇa. Velicˇina snopa bila je 100×5
mm2. Tlak u komori bio je 10−3 Pa. U pulsnom nacˇinu implementacije PE je tretiran
ionskim izvorom ,,Pulsar” (Insitute od Electrophysics, Ekaterinburg, Rusija). Dusˇicˇni
snop iona energije 20 keV, trajanja pulsa 1-0.3 ms s frekvencijom ponavljanja od 1-3
Hz. Doza je bila izmedu 1013 i 1016 iona/cm2 te tlak 10−1 Pa . IR ATR spektri su sni-
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mani na UR-20 i IFS-66 (Bruker, Njemacˇka) spektrometrima s atenuiranom totalnom
refleksijom (ATR) na KRS-5 kristalu (trapez, 45-upadni kut, 25-izlazni). [34]
Prethodna mjerenja nisu se koristila u ovom radu jer se radilo o vrlo sporom
ionu u kojem dominira nuklearna zaustavna moc´ no metoda je univerzalna i cˇesto
koriˇstena. Rezultati prikupljeni iz drugih cˇlanaka za ovaj polimer dani su na slici
3.10. [35, 36] Nije uocˇeno slaganje sa Szenesovim analiticˇkim modelom termalnog
vala. Imamo velika odstupanja. Koriˇstene eksperimentalne tehinike u prosjeku daju
razlicˇite rezultate. Mjerenja metodom ERDA (elastic recoil detection analysis) poka-
zuju vrlo male tragove neovisno o zaustavnoj moc´i projektila. Srednje brzi ioni se
ponasˇaju kao brzi uz vec´a odstupanja od modela. SAXS metoda daje rezultat koji
ipak bolje slijedi zadane pretpostavke modela. Sa grafa se ne vidi opc´i trend tragova.
Iz primjene Szenesova ATSM modela dobilo se je Set ≈ 116 keV/µm za spore ione te
Set ≈ 274 keV/µm za brze ione (Slika 3.10).
Slika 3.8: IR ATR spektar PE a) inicijalni, b) pulsnog ionskog snopa, c) kontinuira-
nog ionskog snopa u ovisnosti o valnom broju za dozu od 1014iona/cm2. Ocˇekivano
opticˇka gustoc´a (apsorbancija) je najmanja za neozracˇeni materijal dok vidimo porast
kod ozracˇivanja. Kod kontinuiranog snopa imamo opc´e povec´anje opticˇke gustoc´e u
odnosu na pulsni dok se za razlikovanje na karakteristicˇnim skupinama (vrhovima)
mora uzeti finiji prikaz sˇto se vidi na slijedec´oj slici. [34]
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Slika 3.9: Ovisnost normalizirane opticˇke gustoc´e (normalizirana apsorbancija) ka-
rakteristicˇnih skupina ν(C = O) 1720 cm−1 linije (trokuti), ν(C = C) 1610 cm−1 li-
nije (kvadrati) u IR ATR spektru PE nakon kontinuiranog (puna linija) i pulsnog
(tocˇkasta linija) tretmana ionskim snopom. Vidimo vec´e vrhove apsorbancije kod
pulsnog nacˇina rada snopa te se ostvaruju za manje doze zracˇenja nego kod kontinu-
iranog. Iz viˇse ovakvih vrhova (pulsnih ili kontinuiranih) moguc´e je odrediti ovisnost
apsorbancije o dozi pomoc´u koje mozˇemo odrediti ovisnost velicˇine tragova o elek-
tronskoj zaustavnoj moc´i. [34]
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Slika 3.10: Eksperimentalni podaci za PC dobiveni iz vec´eg broja cˇlanaka. Na grafu je
osim mjerenja razlicˇitim metodama dan i Szenesov model za brze (brzi-teor) i spore
(spori-teor) tesˇke ione. [35,36]
3.4 PET
Primjer analize provedene kod dobivanja tragova za ovaj polimer dana je na sli-
kama 3.11-3.12. Medu ostalim polimerima u cˇlanku se obradivao i PET (mylar).
Koriˇsteni su filmovi organskih polimera u debljini koja je varirala od 6 do 100 µm.
Desorpcija vodika se inducirala s ionima helija 2.5 MeV, dostavljenim s 3.75 MV
Van DE Graaff akceleratorom. Isti snop promjera 1.2 mm paralelno je koriˇsten i za
ozracˇivanje i mjerenje desorpcije vodika preko reakcije 1H(4He, 4He)1H. Svako mje-
renje uzeto je u obzir kako bi se izracˇunala doza primljena od uzorka te zapocˇelo
novo mjerenje. Odbijeni vodik mjeren je pod 30° pomoc´u ORTEC silicijskog detek-
tora prekrivenog s 12 µm mylar apsorberom. Mjerenja su sprovedena s razlicˇitim
intenzitetima snopa u vakuumskoj komori s vrijednosˇc´u vakuuma iznad 5×10−6mb.
Tok cˇestica pracˇen je preko prikupljenih sekundarnih elektrona izbacˇenih iz tantalo-
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vog uzorka umetnutog u nosacˇ uzorka. [37]
Prethodna mjerenja nisu se koristila u ovom radu jer se radilo o lakom ionu helija
no metoda je univerzalna i cˇesto koriˇstena. Rezultati prikupljeni iz drugih cˇlanaka
za ovaj polimer dani su na slici 3.13. [28, 38–44] Vidimo da tocˇke, uz poneka vec´a
odstupanja, okvirno prate trend Szenesovog modela za brze ione pri cˇemu se i srednje
brzi i spori ioni ponasˇaju kao brzi. Vidimo opc´i trend linearnog povec´anja kvadrata
traga s elektronskom zaustavnom moc´i iona. Iz primjene Szenesova ATSM modela
dobilo se je Set ≈ 417 keV/µm za spore ione te Set ≈ 981 keV/µm za brze ione (Slika
3.13).
Slika 3.11: FTIR spektar PET-a dobiven ozracˇivanjem s 5 nA, 2.5 MeV 4He+
ionima za: (a) 1.9×1013 iona/cm2, (b) 3.8×1013 iona/cm2, (c) 5.6×1013 iona/cm2,
(d) 7.5×1013 iona/cm2.Vidimo da povec´anjem doze zracˇenja karakteristicˇni transmi-
sijski vrhovi ostaju priblizˇno isti dok se opc´a transmisija smanjuje. [37]
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Slika 3.12: Ovisnost desorpcije vodika po ozracˇivanju 2.5 MeV snopom 4He+za
PET u ovisnosti o dozi zracˇenja. Koriˇsten je intenzitet snopa 3-10 nA. Puna crta
oznacˇava eksperimentalnu prilagodbu na podatke pomoc´u koje se mogao odrediti
radijus traga. Vidimo opc´i trend smanjenja desorpcije s dozom zracˇenja. Konkretno
ovdje je odabrana eksponencijalna prilagodba gdje amplituda ovisi o dozi kao C/ϕn
sa slobodnim parametrima C i n, a unutar eksponenta se uz dozu ϕ nalazi parametar
udarnog presjeka koji sadrzˇi trag kao R2pi (pretpostavka cilindricˇnog traga). [37]
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Slika 3.13: Eksperimentalni podaci za PET dobiveni iz vec´eg broja cˇlanaka. Na grafu
je osim mjerenja konduktometrijom dan i Szenesov model za brze (brzi-teor) i spore
(spori-teor) tesˇke ione. [28,38–44]
3.5 PI
Primjer analize provedene kod dobivanja tragova za ovaj polimer dana je na sli-
kama 3.14-3.15. Uz drugi proucˇavani polimer polisulfon (PSU), PI je bio 12µm debeo
film Kaptonr dobavljen od Dupont de Nemours (Hamburg, Njemacˇka). Polimer je
nekristalinicˇan. Polimer je ozracˇen na liniji srednje energije SME na GANIL-u (Grand
Accelerateur National d’Ions Lourds), Caen, Francuska. Ozracˇivanje pomoc´u Kr iona
energije 720 i 755 MeV obavlja se pod vakuumom od oko 2×10−7mbar − a dok je
ozracˇivanje Mo ionima energije 515 MeV obavljeno pod atmosferom kisika na oko 1
bar. Snop je projeciran okomito na uzorak i velicˇine 3 cm × 6 cm. Tok iona ogranicˇen
je na 1-2×108 iona/s cm2 kako bi se sprijecˇilo pregrijavanje uzorka. Za analizu je
koriˇsten FTIR spektrometar Nicolet Magna-IR 750 (Nicolet Instruments GmbH, Of-
fenbach am Main, Njemacˇka) u transmisijskom nacˇinu s rezolucijom 2 cm−1 i pod
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kutem od 55° izmedu povrsˇine uzorka i polarizirane zrake. [45]
Rezultati prikupljeni iz ovog i drugih cˇlanaka za ovaj polimer dani su na slici
3.16. [45–51] Vidimo da tocˇke, uz poneka odstupanja, prate trend Szenesovog mo-
dela. Koriˇstene tehnike daju razlicˇite vrijednosti tragova. . Od navedenih tehnika
vec´e tragove daju GAS FLOW i AFM, s tim da su srednje brzi ioni mjereni AFM-om
blizˇi sporim nego brzim. Slijede FTIR i FEGSEM (field emission gun scanning elec-
tron microscopy), potom FTP (fullerene tracer profiling) pa TEM, uz napomenu da
se spori ioni mjereni FTP metodom ponasˇaju kao brzi. Najmanje tragove daje kon-
duktometrijska metoda. Vidimo opc´i trend povec´anja kvadrata traga s elektronskom
zaustavnom moc´i iona. Iz primjene Szenesova ATSM modela dobilo se je Set ≈ 584
keV/µm za spore ione te Set ≈ 1374 keV/µm za brze ione (Slika 3.16).
Slika 3.14: FTIR spektar poliimida u ovisnosti o valnom broju prije i po ozracˇivanju u
vakuumu s Kr ionima te ionima Mo u atmosferi kisika dozom od 2.5×1012 iona/cm2
sˇto odgovara 16.5 i 23.6 MGy, respektivno. U odnosu na neozracˇeni spektar vidimo
razlicˇit porast apsorbancije za ozracˇivanje ionima Kr u vakuumu gdje znacˇajno rastu
karateristicˇni vrhovi na 3295 cm−1 i 2260 cm−1. Za ozracˇivanje ionima Mo u kisiku
sve postaje josˇ ocˇitije gdje sad imamo znacˇajno povec´anje apsorbancije na cijelom
dijelu spektra pa tako i u ranije navedenim vrhovima koji su sada znatno vec´i. [45]
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Slika 3.15: Normalizirana apsorbancija na vrpci 1117 cm−1 koja pripada grupi CNC
kao funkcija doze ionskog zracˇenja. Imamo ozracˇivanje ionima Kr u vakuumu i
ionima Mo u atmosferi kisika. Vidimo znacˇajniji pad apsorbancije kod ozracˇivanja Mo
pa takvo mjerenji nije od koristi za procjenu dimenzije traga, dok je kod ozracˇivanja
Kr izvjesna i saturacija sˇto upuc´uje da je moguc´e sprovesti analizu. Iz grafa se mozˇe
vrlo jednostavno procijeniti dimenzija traga. U ovom slucˇaju to je eksponencijalna
prilagodba s opc´enitom konstantnom amplitudom gdje trag uz dozu ϕ u eksponent
ulazi kao diferencijalni udarni presjek R2pi odnosno pretpostavljamo cilindricˇne tra-
gove. [45]
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Slika 3.16: Eksperimentalni podaci za PI dobiveni iz vec´eg broja cˇlanaka. Na grafu
je osim mjerenja s razlicˇitim metodama dan i Szenesov model za brze (brzi-teor) i
spore (spori-teor) tesˇke ione. [45–51]
3.6 PMMA
Primjer analize provedene kod dobivanja tragova za ovaj polimer dana je na sli-
kama 3.17-3.19. Koriˇsteni je PMMA debljine 2 mm, Goodfellow Cambridge LTD, UK,
izezan na dimenzije 2×1 cm2. Uzorci su ultrazvucˇno ocˇiˇsc´eni koristec´i destiliranu
vodu na 20 min te potom susˇeni zrakom prije same implantacije. Ocˇiˇsc´eni uzorci
postave se na vodljivi disk koristec´i bakrenu traku. Disk se postavlja na nulti poten-
cijal kako bi se izbjeglo nakupljanje naboja na povrsˇini tokom ozracˇivanja. Uzorci su
implantirani s 400 keV Ag+ ionom na sobnoj temperaturi koristec´i 400 kV NEC ion-
ski implantator. Ag+ioni se ekstrahiraju iz sputter vezije ionskog izvora ,,CHORDIS”
(Cold and Hot Reflex Discharge Ion Source, Model 921). Ekstrahirani ioni se potom
ubrzavaju do 400 keV povec´avajuc´i napon za ubrzavanje. Implantacija se vrsˇi na
razlicˇitim ionskim dozama od 1014 do 5×1015 iona/cm2 pod ultravisokim vakuumom
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reda 10−8 Torr-a. Sˇirina ionskog snopa je bila priblizˇno 3 mm. Snop je mrezˇasto
skenirao povrsˇinu uzorka kako bi se ostvarila uniformna implantacija. Medu osta-
lim, koriˇstena je i Ramanova spektroskopija koristec´i Ramboss Raman spektrometar.
Kao pobudivacˇ je koriˇsten argonski laser na 514.5 nm. Proucˇavalo se podrucˇje od
400-2400 cm−1 pod atmosfersim uvjetima. UV-vidljivi transmisijski spektar dobio se
u podrucˇju 300-900 nm koristec´i UV-1800 Shimadzu double-beam spektrofotome-
tar. [52]
Rezultati prikupljeni iz cˇlanaka za ovaj polimer dani su na slici 3.20. [53–57]
Uocˇeno je slaganje sa Szenesovim analiticˇkim modelom termalnog vala uz odredena
vec´a odstupanja na vec´im vrijednostima elektronske zaustavne moc´i i za spore ione
koji se ponasˇaju poput brzih. Koriˇstene tehnike daju razlicˇite vrijednosti tragova
gdje je posebno zanimljivo uocˇiti kako se srednje brzi ioni kod AFM/SFM mjerenja
ponasˇaju i kao spori i kao brzi. Najvec´e tragove daje AFM metoda za srednje brze
ione koji se ponasˇaju poput sporih. Slijedi SFM za srednje ione koji se istovremeno
ponasˇaju i poput brzih i sporih. Slijede SAXS, SFM za spore i AFM za spore gdje
se svi ponasˇaju poput brzih iona. Vidimo opc´i trend linearnog povec´anja kvadrata
traga s elektronskom zaustavnom moc´i iona. Naponema: SFM i AFM je naziv za
istu eksperimentalnu tehniku te ovdje naznacˇuje tek razlicˇita mjerenja. Iz primjene
Szenesova ATSM modela dobilo se je Set ≈ 198 keV/µm za spore ione te Set ≈ 466
keV/µm za brze ione (Slika 3.20).
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Slika 3.17: Ramanovi spektri neozracˇenog i Ag+ implantiranog PMMA za razlicˇite
doze zracˇenja. Pune linije oznacˇavaju originalne vrpce, a izlomljene crte dva
prilagodena Gaussova vrha za D (lijevi) i G (desni) vrpce implantiranog PMMA pri
dozama od 5×1014, 1×1015 i 5×1015 iona/cm2. Vidimo pad intenziteta vrhova u ovis-
nosti o dozi zracˇenja. [52]
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Slika 3.18: Spektar opticˇke transmitancije za neozracˇeni i Ag+ implantirani PMMA
u ovisnosti o valnoj duljini za razlicˇite doze zracˇenja. Transmitancija materijala raste
za vec´u valnu duljinu zracˇenja. Vidi se spusˇtanje transmitancije u ovisnosti o dozi
zracˇenja, pri cˇemu za nizˇe doze imamo osˇtriju saturaciju u ovisnosti o valnoj duljini.
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Slika 3.19: ID/IG omjer i % transmitancije za Ag+ implantirani PMMA u ovisnosti
o dozi zracˇenja. Vidimo skok u omjeru intenziteta za 1× 1015 iona/cm2 te vec´ ra-
nije uocˇen pad tranmitancije u ovisnosti o dozi zracˇenja. Uz pomoc´ ovog i ra-
nije prikazanog Ramanovog spektra mozˇe se pretpostavljanjem specificˇne ovisnosti
ID/IG = (−126 + 0.033λ)[A˚]/La[A˚], gdje je λ ,,valna dulina pobudenja” u angstro-
moma iz Ramanovog spektra, La velicˇina kristalita odnosno radijusa samog ionskog
traga u angstromima, a ID/IG odnos intenziteta dvaju vrhova D i G vrpci. [52]
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Slika 3.20: Eksperimentalni podaci za PMMA dobiveni iz vec´eg broja cˇlanaka. Na
grafu je osim mjerenja s razlicˇitim metodama dan i Szenesov model za brze (brzi-
teor) i spore (spori-teor) tesˇke ione. [53–57]
3.7 PP
Primjer analize provedene kod dobivanja tragova za ovaj polimer dana je na sli-
kama 3.21-3.23. Sva eksperimentalna istrazˇivanja sprovedena su koristec´i 15 UD
Pelletron pri Nuclear Science Centre, New Delhi. Ionski snopovi od 130 MeV 107Ag
nabojnih stanja 11+, 14+, 25+ bombardirali su PP i PET. Koriˇstene polimerske folije
imale su debljinu izmedu 6 i 20 µm . Intenziteti snopova kod svih ispitivanja bili su
manji od oko 6.25×109 iona/cm2 Velicˇina snopa na uzorku bila je oko 3×3 mm2, a
kut nagiba izmedu mete u odnosu na smjer snopa 15°. Cˇestice odbijene od filma re-
gistrirale su se pomoc´u SSB (silicon surface barrier) detektora sa zonom osiromasˇenja
od 1 mm te pod 45° u odnosu na smjer snopa. Energijska rezolucija koriˇstenog de-
tektora bila je oko 30 keV za 5.48 MeV α cˇestice. PP film debljine 26 µm postavljen je
ispred detektora kako bi zaustavio sve odbijene cˇestice osim vodika. Sva ozracˇivanja
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su izvrsˇena na sobnoj temperaturi. [58]
Rezultati prikupljeni iz ovog i drugog cˇlanka za ovaj polimer dani su na slici 3.24.
[28,58] U ovom slucˇaju je Szenesov model bio sporedan jer je osnovni cilj bio proucˇiti
ovisnost nabojnog stanja za formiranje traga. Uocˇila se jaka ovisnost radiusa traga
o nabojnom stanju projektila kako je prikazano na slici 2.23. Ioni se ponasˇaju kao
brzi. TEM je dao nesˇto manje tragove nego mjerenje vodljivosti. Imamo nesˇto vec´a
odstupanja od modela za TEM. Iz mjerenja se ne mozˇe naslutiti ovisnost velicˇine
kvadrata traga o elektronskoj zaustavnoj moc´i. Iz primjene Szenesova ATSM modela
dobilo se je Set ≈ 240 keV/µm za spore ione te Set ≈ 565 keV/µm za brze ione (Slika
3.24).
Slika 3.21: Dva tipicˇna spektra koja mjere odboj vodikovih atoma pri dozama od
0.12×1014 iona/cm2 (donja krivulja) i 0.48×1012 iona/cm2 (gornja krivulja) 107Ag11+
iona na PP. Vidimo da je za vec´u primijenjenu dozu srebrovih iona doprinos odbijenih
vodikovih atoma vec´i. Vidimo da je izmedu nekih 1.4-1.8 mm u dubini materijala
najvec´i diprinos broju izbacˇenih vodika. [58]
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Slika 3.22: Koncentracija vodika (izrazˇena u atomi/cm2) do dubine od ≈ 100nm u
ovisnosti o dozi zracˇenja za 11+, 14+ i 25+ 107Ag za PP i PET. Vidimo da je koncen-
tracija vodika u materijalima vec´a za vec´a nabojna stanja ulaznog iona, odnosno da
je kolicˇina izbacˇenog vodika manja. Efekt je izrazˇeniji kod PP nego kod PET. Tome
su uzrok CH3 skupine prisutne u PP koje su osjetljive na zracˇenje te vec´a zaustavna
moc´ iona (86.5 MeV/mg/cm2 za PP te 70.5MeV/mg/cm2 za PET). Sa slike se do-
datno vidi pad vodika u ovisnosti o primijenjenoj dozi zracˇenja, pri cˇemu je drugi dio
kruvulje sa sporijim padom pocˇetak preklapanja tragova. Puna linija oznacˇava eks-
ponencijalnu prilagodbu na podatke iz koje se odreduju dimenzije tragova, ali sada
za razliku od PI-a imamo dva zasebna podrucˇja prilagodbe s razlicˇitim vrijednostima
amplitude i udarnog presjeka. Iz prvog dijela odreduje se velicˇina tragova kako nas
zanimaju pojedinacˇni tragovi. [58]
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Slika 3.23: Graf ovisnosti promjera traga o nabojnom stanju projektila za PP i PET.
Kao sˇto je vec´ ranije napomenuto vidi se vec´i utjecaj povec´anja ionskog naboja na PP
nego PET. U svakom slucˇaju, ovime je dokazano da ionsko stanje utjecˇe na velicˇinu
ionskog traga za povrsˇinske slojeve materijala. Eksperimentalna prilagodba na po-
datke je oblika βqm gdje je q nabojno stanje projektila, a parametar im je odreden
na 1.25 za PP te 0.741 za PET. Analogna procedura za slojeve na dubini 1-1.5 mm
pokazala je neosjetljivost materijala na nabojno stanje. [58]
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Slika 3.24: Eksperimentalni podaci za PP dobiveni iz vec´eg broja cˇlanaka. Na grafu
je osim mjerenja s razlicˇitim metodama dan i Szenesov model za brze (brzi-teor) i
spore (spori-teor) tesˇke ione. [28,58]
3.8 PS
Primjer analize provedene kod dobivanja tragova za ovaj polimer dana je na sli-
kama 3.25-3.27. Uzorci PS bilo su komercijalno dostupni, gustoc´e su oko 1.06 g/cm3
te debljine od oko 53 µm. Viˇse od 10 komada PS filmova postavilo se zajedno te
se krenulo s ozracˇivanjem, u vakuumu, okomito na povrsˇine uzoraka, pomoc´u brzih
Fe iona, dozom od 1012 iona/cm2. Ozracˇivanja su sprovedena na radijacijskom ter-
minalu postrojenja za istrazˇivanje pomoc´u tesˇkih iona u Lanzhou (HIRFL). Tokom
ozracˇivanja tok snopa je ogranicˇen na 2×108 /cm2/s kako bi se izbjeglo dodatno za-
grijavanje uzoraka. Doza je provjeravana kontinuirano mjerec´i emisiju sekundarnih
elektrona induciranih prolaskom iona kroz 8 µm debeli sloj Al/Al/Al folija ispred
uzorka te kalibrirana Faradayevom cˇasˇicom. Energija iona po prolasku folija pro-
cijenjena je na oko 1.157 GeV. Ozracˇeni PS filmovi proucˇavali su se UV-vidljivom
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spektroskopijom nakon sˇto su odlezˇali nekoliko mjeseci u sobnim uvjetima. Od svih,
samo folije kroz koje su prosˇli ioni, su odabrane za analizu kako bi se izbjegli bilo
kakvi implatacijski efekti. UV-vidljivi podaci spektara su prikupljani Hitachi U-3010
spektrofotometrom u transmisijskom nacˇinu. Raspon valnih duljina je 190-900 nm.
Sva mjerenja obavljena su na sobnoj temperaturi. [59]
Rezultati prikupljeni iz ovog i drugih cˇlanaka za ovaj polimer dani su na slici
3.28. [59–64] Uocˇeno je dobro slaganje sa Szenesovim analiticˇkim modelom ter-
malnog vala. Koriˇstene tehnike daju razlicˇite vrijednosti tragova gdje je posebno
zanimljivo uocˇiti kako se spori ioni kod AFM-a ponasˇaju u nekim slucˇajevima kao
brzi, a drugdje opet kao spori. Dana je i vlastita eksperimentalna prilagodba (brzi-
exp) na podatke za brze ione s tim da su se u nedostatku boljih podataka za brze
uzeli brzi i spori ioni te eksperimentalna prilagodba za spore ione (spori-exp). Tra-
govi izmjereni tehnikama AFM i XRD/DSC daju nesˇto vec´e vrijednosti pri cˇemu se
spori ioni kod AFM mjerenja ponasˇaju polovicˇno kao brzi i kao spori. Nanoindenter
(mjerenja tvrdoc´e) i UV/VIS mjerenja daju nesˇto manje tragove. Vidi se opc´i linearni
trend povec´anja vrijednosti kvadrata radijusa traga o elektronskoj zaustavnoj moc´i.
Iz primjene Szenesova ATSM modela dobilo se je Set ≈ 324 keV/µm za spore ione te
Set ≈ 763 keV/µm za brze ione. Eksperimentalnom prilagodbom na podatke za brze
ione dobiveno je slijedec´e: Set ≈ 539 keV/µm, gdje je g = 0.19± 0.02, a a(0) = 4nm
sˇto je blizu Szenesovim vrijednostima za brze tesˇke ione g=0.17 i a(0)=4.5 nm, dok
je eksperimentalnom prilagodbom na podatke za spore ione dobiveno: Set ≈ 1147
keV/µm, gdje je g = 0.7± 0.2, a a(0) = 11.2nm sˇto se znatno razlikuje od Szenesovih
vrijednosti za spore tesˇke ione g=0.4 i a(0)=4.5 nm (Slika 3.28).
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Slika 3.25: UV-vidljivi spektar neozracˇenog i ozracˇenog PS s ionima Fe pri dozi od
1×1012 iona/cm2 za razlicˇite vrijednosti elektronske zaustavne moc´i. Pune linije su
teorijska prilagodba pomoc´u tzv. ,,multi Lorentz funkcija”. Vidimo dobro slaganje
eksperimentalnih podataka s teorijskim predvidanjem. Razlicˇite vrijednosti zaus-
tavne moc´i ostvarile su se postepenom karbonizacijom materijala po ozracˇivanju.
Na grafu vidimo opc´e smanjenje transmisije za vec´u zaustavnu moc´ iona uz sporiju
saturaciju za vec´e vrijednosti valne duljine. [59]
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Slika 3.26: Refrakcijski indeksi (a) i ekstinkcijski koeficijenti (b) neozracˇenog
i ozracˇenog PS s 1.157 GeV Fe ionima kao funkcija valne duljine za razlicˇite
elektronske zaustavne moc´i iona: 1.75, 2.17 i 3.37 keV/nm. Doza zracˇenja je
1×1012 iona/cm2. Vidimo da su refrakcijski indeksi neovisni o valnoj duljini dok
se ekstinkcijski naglo smanjuju. Ovi koficijenti koriˇsteni su kod analize velicˇine tra-
gova. [59]
Slika 3.27: Radijusi tragova odredeni iz tzv. efektivne teorije medija (eng. effective
medium theory) s 1.157 GeV Fe ionom za ozracˇivanje PS-a na razlicˇitim vrijednos-
tima elektronske zaustavne moc´i. U gornjem lijevom kutu dana je eksperimentalna
prilagodba na podatke. Vidimo povec´anje ionskih tragova s elektronskom zaustav-
nom moc´i. [59]
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Slika 3.28: Eksperimentalni podaci za PS dobiveni iz vec´eg broja cˇlanaka. Na grafu
je osim mjerenja razlicˇitim metodama dan i Szenesov model za brze (brzi-teor) i
spore (spori-teor) tesˇke ione. Dana je i vlastita eksperimentalna prilagodba (brzi-
exp) na podatke za brze ione te eksperimentalna prilagodba za spore ione (spori-
exp). [59–64]
3.9 PTFE
Primjer analize provedene kod dobivanja tragova za ovaj polimer dana je na
slikama 3.29-3.30. PTFE filmovi debljina 25, 50 i 100 µm (Enflo Canada Ltd.)
ozracˇivani su okomito na povrsˇinu na sobnoj temperaturi s Xe, Au i U ionima ener-
gija od 0.9 do 1.5 GeV-a i doza izmedu 108 i 1013 iona/cm2 akceleratorom UNILAC
pri GSI, Darmstadt, Njemacˇka. Doza je mjerena prac´enjem signala iz Al folije koja
je emitirala sekundarne elektrone te se nalazila ispred uzoraka, a kalibrirana je Fa-
radayevom cˇasˇicom (preciznost ˜20 %). Analiza uzoraka izvrsˇena je tokom i po
ozracˇivanju. Novi postav na M3 snopovskoj liniji na GSI-u omoguc´io je in situ infra-
crvenu spektroskopiju (FTIR) koriˇstenu za analizu jedog uzorka ozracˇenog razlicˇitim
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ionskim dozama. Za FTIR mjerenja koriˇsten je NICOLET 6700 FT-IR spektrometar
proizvodacˇa ThermoFisher Scientific u rasponu 400-4000 cm−1, rezolucije 2 cm−1.
Sprovedena su i dodatna mjerenja drugim tehnikama. [65]
Rezultati prikupljeni iz ovog i drugih cˇlanaka za ovaj polimer dani su na slici
3.31. [65–67] Mjerenja prate trend zadan Szenesovim analiticˇkim modelom termal-
nog vala, uz nesˇto vec´e, no viˇse manje konstantne iznose odstupanja. Svi ioni se
ponasˇaju kao brzi. Primijenjene eksperimentalne tehinike prosjecˇno daju razlicˇite re-
zultate. SAXS i AFM daju nesˇto vec´e tragove uz napomenu da se AFM srednje brzi
ioni ponasˇaju kao brzi. FTIR mjerenja daju nesˇto manje tragove s tim da se spori
ioni ponasˇaju poput brzih. Vidimo opc´i trend linearnog povec´anja kvadrata traga s
elektronskom zaustavnom moc´i iona. Iz primjene Szenesova ATSM modela dobilo se
je Set ≈ 793 keV/µm za spore ione te Set ≈ 1867 keV/µm za brze ione (Slika 3.31).
Slika 3.29: FTIR spektar neozracˇenog i ozracˇenog PTFE filma za razlicˇite doze
zracˇenja s 0.9 GeV Au ionom u ovisnosti o valnom broju. Oznacˇene su nove IR
apsorpcijske vrpce uocˇene po ozracˇivanju folije. Vidimo porast apsorbancije s dozom
zracˇenja, a porast ponajviˇse utjecˇe na karateristicˇne vrhove razlicˇitih skupina. [65]
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Slika 3.30: Eksponencijalna prilagodba apsorbancije u ovisnosti o dozi zracˇenja nekih
od novih kemijskih grupa u PTFE za filmove ozracˇene 1.3 GeV U snopom. Eksponen-
cijalna prilagodba slicˇna je vec´ napomenutoj kod PI. Vidimo nagli porast apsorbancije
iznad doze od 1×1011 iona/cm2 dok je do tad priblizˇno konstantna. Razlicˇite kemij-
ske skupine pokazuju razlicˇitu inicijalnu apsorbanciju i stopu porasta. [65]
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Slika 3.31: Eksperimentalni podaci za PTFE dobiveni iz vec´eg broja cˇlanaka. Na grafu
je osim mjerenja s razlicˇitim metodama dan i Szenesov model za brze (brzi-teor) i
spore (spori-teor) tesˇke ione. [65–67]
3.10 PVDF
Primjer analize provedene kod dobivanja tragova za ovaj polimer dana je na sli-
kama 3.32-3.34. Ozracˇivao se 25 µm debeo film αPVDF proizvrden od tvrtke Solvay
iz Belgije. Polimer ima kristalinicˇnost od 55 % te gustoc´u od 1.77 g/cm3. Ozracˇivanja
su sprovedena pri GANIL. Caen, Francuska. Ionski snop je skenirao vertikalno i hori-
zontalno. Koriˇsten je 40 mm sˇirok kruzˇni prozor kako bi se pstvario uniforman snop
sˇirine 50 mm. Snop udara okomito na plohe stakla i uzorka. Ozracˇivanja su vrsˇena
ili pd vakuumom ili pod atmosferom helija, na sobnoj temperaturi s viˇse iona koji
variraju od O do Sn, u rezˇimu elektronske zaustavne moc´i (dE/dx)e. Filmovi su se
po ozracˇivanju cˇuvali na -20 °C. FTIR analiza obavila se s rezolucijom od 2 cm−1. Svi
spektri snimani su pod Brewsterovim kutem od 55°. Spektri su po potrebi normalizi-
rani na 1 µm debeo film i/ili odbijeni od neozracˇenog PVDF uzorka. Absorbancije su
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uzete kao maksimumi karakteristicˇnih vrhova. [68]
Rezultati prikupljeni iz ovog i ostalih cˇlanaka za ovaj polimer dani su na slici 3.35.
[68–72] Uocˇeno je dobro slaganje sa Szenesovim analiticˇkim modelom termalnog
vala, uz odredena odstupanja. Primijenjene eksperimentalne tehinike prosjecˇno daju
razlicˇite rezultate. Za analizu sporim ionima nije bilo dovoljno eksperimentalnih
podataka kako se spori ioni ponasˇaju slicˇnije brzim. Tragovi izmjereni tehnikom
depolarizacije daju najvec´e vrijednosti. Potom slijedi FTIR i SEM, a naposlijetku su tu
XRD i DSC. Vidi se opc´i linearni trend povec´anja vrijednosti kvadrata radijusa traga
o elektronskoj zaustavnoj moc´i. Iz primjene Szenesova ATSM modela dobilo se je
Set ≈ 320 keV/µm za spore ione te Set ≈ 753 keV/µm za brze ione. Eksperimentalnom
prilagodbom na podatke za brze ione dobiveno je slijedec´e: Set ≈ 152 keV/µm, gdje
je g = 0.24± 0.02, a a(0) = 2.4± 0.6nm sˇto se razlikuje od Szenesovih vrijednosti za
brze tesˇke ione g=0.17 i a(0)=4.5 nm (Slika 3.35). Na slikama 3.36 i 3.37. dana je
izdvojena analiza za XRD i depolarizacijsku tehniku. Eksperimentalnom prilagodbom
na podatke za ove tehnike dobiveni su slijedec´i parametri: za XRD imamo Set ≈ 542
keV/µm, gdje je g = 0.22 ± 0.02, a(0) = 2.4nm, a za depolarizaciju Set ≈ 3860 ± 28
keV/µm, gdje je g = 0.21± 0.03, a(0) = 11.8± 0.8nm.
100
Slika 3.32: FTIR spektar apsorbancije u ovisnosti o valnom broju za podrucˇje jed-
novrpcˇanih vibracija istezanja (3400-2700 cm−1) za neozracˇeni PVDF, PVDF ozracˇen
ionima Kr dozom od 15.3 MGy te taljeni PVDF. Asimetricˇne i simetricˇne vibracije is-
tezanja CH2 grupa nalaze se na 3025 cm−1 i 2985 cm−1. Alkinska vibracija istezanja
CH locirana je na 3304 cm−1. Vidimo da je za neozracˇeni PVDF najvec´a apsorbancija
za karateristicˇne vrhove dok je najmanja za taljeni. PVDF ozracˇen ionima Kr pokazuje
dosta sˇiroki vrh i ima opc´e povec´anu absorbanciju. [68]
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Slika 3.33: Graf utjecaja tipa iona za evoluciju intenziteta CH2 asimetricˇnih vibracija
istezanja (3025 cm−1) kao funkcija apsorbirane doze. Spektri su normalizirani na 1
µm debeo film. Vidimo da absorbancija naglo opada s dozom zracˇenja, prosjecˇno je
najvec´a za Ar, pa slijedi O, Kr i naposlijetku Sn. Koristec´i standardnu eksponencijalnu
prilagodbu za cilindricˇne tragove kao kod PI mozˇemo odrediti velicˇinu tragova za
svaku vrpcu i svaki ion. [68]
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Slika 3.34: Graficˇki prikaz radijusa tragova u ovisnosti o elektronskoj zaustavnoj moc´i
iona. Vidimo povec´anje amorfizacijskog radijusa za povec´anje elektronske zaustavne
moc´i. Vrijednosti dobivene FTIR mjerenjima su srednje vrijednosti odredene na cˇetiri
kristalne vrpce i dvije vrpce istezanja CH2 grupa. Vidimo i mjerenja iz drugog cˇanka
dobivena difrakcijom X zraka ikoja uz nesˇto manji nagib pravca prate slicˇnu ovisnost.
[68]
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Slika 3.35: Eksperimentalni podaci za PVDF dobiveni iz vec´eg broja cˇlanaka. Na
grafu je osim mjerenja razlicˇitim metodama dan i Szenesov model za brze (brzi-teor)
i spore (spori-teor) tesˇke ione te vlastita eksperimentalna prilagodba (brzi-exp) na
podatke za brze ione. [68–72]
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Slika 3.36: Zasebna analiza provedena za XRD mjerenja. Uz mjerenja na slici je dana
i eksperimentalna prilagodba.
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Slika 3.37: Zasebna analiza provedena za depolarizacijska mjerenja. Uz mjerenja na
slici je dana i eksperimentalna prilagodba.
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4 Zakljucˇak
Sveukupni prikupljeni eksperimentalni podaci iz internet baze znanstvenih ra-
dova ,,Web of Science” [1] u veziji 5.28 dali su vrlo zadovoljavajuc´e rezultate kako
kolicˇinom pronadenog materijala tako i odgovaranju zahtjevima pretrage. Za pre-
trazˇivane polimere: CN, CR-39 ili PADC, PC, PE, PEEK, PET, PI, PMMA, PP, PS, PTFE,
PVC i PVDF trazˇio se podatak o dimenzijama latentnih ionskih tragova iniciranih
zracˇenjem brzih tesˇkih iona (eng. swift heavy ions). Za sve polimere osim PEEK i
PVC pronasˇli su se barem nekakvi podaci. Za CN nije pronaden dovoljan broj poda-
taka za analizu.
Tragovi u trazˇenim polimerima proucˇavali su se vrlo raznolikim metodama: FTIR,
Ramanova spektroskopija, jetkanje, DSC, XRD, SANS, SAXS, opticˇka/UV spektosko-
pija, mjerenje vodljivosti (konduktometrija), TEM, SEM, SFM/AFM. U okviru ovog
rada obradene su i neke druge dodatne, ali ,,sporedne”, eksperimentalne tehnike.
One su ili manje vazˇne u okviru teme ili vrlo specializirane/ogranicˇene ili varijante
prethodno vec´ navedenih metoda.
Model, za koji se je unaprijed pretpostavilo da vrijedi, i uz pomoc´ koga se se in-
terpretirali eksperimentalni podaci o ionskim tragovima u polimerima, jest analiticˇki
model termalnog vala (analytical thermal spike model, ATSM) [2]. On predstav-
lja model sˇirenja amorfizacije po udaru brzog tesˇkog iona u materijal, a pokazao se
univerzalan i primijenjiv u najˇsirem spektru materijala kako izolatorskih tako i polu-
vodicˇkih. Taj model je dokazao svoju ispravnost i unutar opsega ovog rada. Usproks
odstupanjima, koji su poslijedica razlicˇitih metoda i nacˇina mjerenja, dobiveni podaci
slijede trendove predvidene modelom.
Glavni trend je povec´anje kvadrata radijusa ionskog traga o linearnoj elektron-
skoj zaustavnog moc´i iona. Razlicˇite tehnike su rezultirale razlicˇitim prosjecˇnim
velicˇinama tragova. Tako je AFM/SFM metoda gotovo uvijek davala najvec´e tra-
gove koji su poslijedica nacˇina mjerenja. Takvo mjerenje je ogranicˇeno sˇirinom vrha
pretrazˇne glave nosacˇa te mozˇe nesˇto rec´i samo za strukture sumjerljive ili vec´e od
nje (slicˇno kao kod difrakcije zracˇenjem). Najmanje tragove u prosjeku daje XRD,
barem u okviru polimera PVDF kod kojega se znacˇajnije primijenjivala difrakcija X
zraka. Nesˇto vec´e tragove od XRD-a ima TEM, a josˇ vec´e ima UV-vidljiva spektosko-
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pija, SEM, mjerenje vodljivosti (konduktometrija), FTIR i SAXS. Od dodatnih tehnika
tu se isticˇe depolarizacijska metoda koja kod PVDF daje najvec´e tragove, pa je tako
osim AFM-a metoda s najvec´im tragovima.
Redovita pojava kod prisutnih podataka jest da su se ioni cˇesto ponasˇali kao brzi
neovisno u kojem su rezˇimu brzine, iako naravno postoje i slucˇajevi s drugacˇijim
ponasˇanjem (npr. srednje brzi ioni sa sva tri svojstva brzine, srednje brzi kao spori
te spori kao brzi). To bi moglo upuc´ivati da je mozˇda potrebno modificirati Szenesov
model za spore i brze ione. Sugerira se da bi mozˇda bilo bolje odabrati < 0.5 MeV/n
za spore ione te > 1 MeV/n za brze, iako bi takav rezˇim trebao biti rezerviran za
,,spore i lagane” ione kao sˇto je podrobnije opisano u [2].
Dodatan fenomen koji je istrazˇen unutar okvira rada jest ovisnost velicˇine traga o
nabojnom stanju projektila iona za povrsˇinske slojeve (do 100 nm u dubinu) u PET-u,
a narocˇito za PI. Tu je utvrdeno da postoji vrlo jaka sveza izmedu povec´anja velicˇine
traga i viˇsekratnika nabojnog stanja. Ta veza ima ovisnost kao ∼ nabojm gdje je m
odreden na 1.25 za PP te 0.741 za PET. Na vec´im dubinama materijala (1-1.5 mm)
ovaj efekt nestaje.
Perspektiva za nastavak istrazˇivanja prvenstveno lezˇi u vrlo malom broju mjere-
nja ionskih tragova na polimerima, jer je dosad najvec´a kolicˇina mjerenja izvrsˇena
na raznim kristalinicˇnim izolatorima. Osim vec´eg broja mjerenja za razlicˇite elek-
tronske zaustavne moc´i razlicˇitih tesˇkih iona, svakako je dobro obratiti pozornost na
utjecaj vrste tehnike na dimenziju traga, sˇto je vrlo netrivijalan i opsezˇan pothvat.
Od dodatnih problema tu je utjecaj ionskog stanja na velicˇinu traga, zanemarena i
nedovoljno istrazˇena pojava, te novozapazˇeni fenomen zvan anomalni VE pronaden
kod poluvodicˇa GeS koji bi se u buduc´nosti mogao pronac´i i kod nekih polimera.
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Dodaci
Dodatak A Primjer metodologije za dobivanje dimen-
zija tragova
Iz izvora [75] navode se svi potrebni koraci na primjeru FTIR analize vrpce 1117
cm−1 u PI gdje se, medu ostalim, sistematski proucˇavala ovisnost tragova o masi
iona. Na slikama 3.38-3.41 prikazani su koraci analize gdje je eksperimentalni dio
vrlo opsˇirno opisan u izvoru, te primjer prilagodbe na podatke na 3.42. Iz prilagodbe
podataka sa slike 3.39 je dobiveno za radijus traga R = 6.3 ± 0.4nm sˇto se vrlo
dobro slazˇe s vrijednosˇc´u na slici 3.41 (tocˇka 98 molibden). Procedura se ponovi i
za druge projektile na slici 3.40 gdje dozu (D) treba preracˇunati iz Gy u povrsˇinsku
dozu ,,fluence” (Φ) ione/cm2 pomoc´u relacije D = e∆EΦ
dρ
, gdje je e elementarni naboj,
∆E deponirana energija, d dubina prodiranja, a ρ gustoc´a mete, te se tako dobije
kompletna ovisnost radijusa traga o masi projektila. Vidimo da ovisnost ima pocˇetni
nagli porast koji se vec´ na 78 (kripton) usporava (Slika 3.41).
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Slika A.1: Infracrveni spektar 12 µm debelog filma PI ozracˇenog s ionima Mo energije
5.2 MeV/nuk. Na spektru vidimo promjenu apsorbancije za razlicˇite doze zracˇenja.
Analiza je obavljena za PI 1117 cm−1 vrpcu. [75]
Slika A.2: Promjena apsorbancije razlicˇitih infracrvenih vrpci kao funkcija doze za
12 µm debelu foliju PI po ozracˇivanju ionima Mo energije 5.2 MeV/nuk. Analiza je
obavljena za PI 1117 cm−1 vrpcu. [75]
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Slika A.3: Apsorpcija vrpce PI 1117 cm−1 kao funkcija doze izrazˇene u greyima (Gy)
za razlicˇite ione raznih energija. [75]
Slika A.4: Efektivni radijus traga procijenjen iz prethodnog FTIR mjerenja vrpce PI
1117 cm−1 za razlicˇite mase projektila. [75]
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Slika A.5: Eksponencijalna prilagodba vrpce PI 1117 cm−1 sa slike 3.39. Koriˇstena
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